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AB ST RAC T 
Cavi ta t ion  damage tes ts  on a v a r i e t y  of ma te r i a l s  i n  water and 
mercury have been c a r r i e d  out during t h i s  repor t ing  per iod.  Although 
the  da t a  i s  not complete a t  t h i s  s tage  of t he  t es t s ,  t h i s  r epor t  sum- 
marizes the q u a n t i t a t i v e  da t a  ava i lab le  t o  d a t e ,  and var ious  s i g n i f i -  
c i e n t  conclusions a r e  reached. 
Cavi ta t ion  damage da ta  on s t a i n l e s s  s t e e l ,  r e f r a c t o r y  ma te r i a l s ,  
carbon s tee l ,  aluminum, p l ex ig l a s ,  and a s e r i e s  of copper and n i cke l  
a l l o y s  of varying h e a t - t r e a t s ,  i s  presented.  An at tempt  to c o r r e l a t e  
t h i s  da t a  with material proper t ies ,  degree of c a v i t a t i o n ,  and v e l o c i t y  
e f f e c t s  shows t h a t  a s i n g l e  material property i s  not  s u f f i c i e n t .  
Rather,  a s u i t a b l e  grouping of  mater ia l  p rope r t i e s  remains t o  be de t e r -  
mined. Veloci ty  e f f e c t s  are shown and explained i n  r e l a t i o n  t o  changes 
i n  loca l  flow condi t ions .  Pressure p r o f i l e s  f o r  the  var ious  c a v i t a t i o n  
condi t ions ,  including th ree  pressure t ap  loca t ions  on the sur face  of  t h e  
t es t  specimens, are a l s o  shown and r e l a t e d  t o  the  damage. 
A more comprehensive report  w i l l  be issued a t  a l a t e r  
t he  p re sen t ly  envisioned tes t  program has been completed. 
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v l i i  
I. , 0 INTRODUCTION 
This  r epor t  covers some aspec ts  of the cont inuing i n v e s t i g a t i o n  
of c a v i t a t i o n  damage induced by mercury and water flowing i n  c a v i t a t i n g  
v e n t u r i s ,  a t  The Univers i ty  of  Michigan. Although the inves t iga t ion  i s  
not complete, some of t he  poin ts  from the  p re sen t ly  ava i l ab le  da t a  seem 
s u f f i c i e n t l y  s i g n i f i c a n t  t o  j u s t i f y  an i n t e r i n  r epor t  of t h i s  na ture .  
More comprehensive data,  consider ing those aspects covered i n  
the  present  r e p o r t ,  as w e l l  as o the r s ,  w i l l  be reported a t  a la ter  da t e .  
a 
2 .O EXPERIMENTAL AW-MGENENTS 
2.1 Venturis  and Specimens 
The da ta  has been taken in  The Univers i ty  of Michigan mercury 
and water c a v i t a t i n g  ven tu r i  f a c i l i t i e s  descr ibed i n  previous papers ,  
2 ,  e t c .  
1, 
The bas ic  ven tu r i  design used i s  shown i n  Figure 1. However, 
t h i s  has appeared i n  two vers ions:  t h a t  shown i n  Figure 1 which pro- 
v ides  space €or two plate- type t e s t  specimens wi th  an angle  of separa-  
t i o n  of 90"; and a second vers ion (used only i n  the  water loop) which 
holds  th ree  p la te - type  specimens, located symmetrically wi th  120" sepa- 
r a t i o n .  The v e n t u r i  flow-paths are  i d e n t i c a l  except f o r  t he  t es t  
specimens. 
The p la te - type  specinens used, a l igned  t o  the flow, are shown i3 
Figures  2 ,  3 ,  and 4 ,  with t h e i r  ho lders .  While the  g r e a t  major i ty  of 
t he  tes ts  have u t i l i z e d  t h i s  type of specimen, some t e s t s  have been coa- 
ducted wi th  1/4" diameter pin-type specimen held wi th  i t s  a x i s  mrmal t o  
the  flow a t  the  same axial  loca t ion  as t he  p la te - type  specimens. Figure 
5 i s  a drawing of a specimen 05 t h i s  type.  While the p la te - type  spec i -  
mens and specimen holders  are contoured t o  match the v e n t u r i  w a l l  pro- 
f i l e ,  i t  w i l l  be noted t h a t  t h e  shoulders  on the  p in  a r e  not  s o  COR- 
toured so  t h a t  a s l i g h t  d i scon t inu i ty  with t h e  ven tu r i  wa l l  e x i s t s  a t  










Figure 2. Photograph of Specimen Holder With Test 
Specimen in Place. 
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Fig. 3 .  Drawing of Damage Specimen. 
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2 . 2  Flu id  Conditions 
The f l u i d s  used t o  the present have been water and mercury. I n  
s u b s t a n t i a l l y  a l l  cases  the water has been a t  approximately room temper- 
a t u r e ,  and with a i r  content  near s a tu ra t ion  f o r  STP. The s o l i d  impurity 
content  of t he  water is  about t ha t  ot t a p  water (about 200 ppm i n  the  
present  case)  and the  pH about 9.7. 
The mercury temperature has a l s o  been approximately ambient f o r  
almoqt a l l  the  runs,  although a s ingle  50 hour run a t  500' has been com- 
p l e t ed .  I n  most of the  runs i t  has been found t h a t  t r a c e  contents  of 
water  and a i r  were en t ra ined .  Measurements have shown t h a t  t h e  quant i ty  
of water for these runs is on the order  of 0.5 t o  1.0% by volume. How- 
eve r ,  a s i n g l e  run w i t h  "dry"* mercury a t  room temperature of 400 hours 
t o  the  present  is ava i l ab le ,  and the  mercury a s  used i n  the high temper- 
a t u r e  run was "dry." As explained l a t e r  the  "dry" mercury has been 
found t o  be much l e s s  damaging than the "wet." This r a t h e r  unexpected 
r e s u l t  emphasized the  s e n s i t i v i t y  of damage t o  apparent ly  minor e f f e c t s ,  
and a l s o  the  necess i ty  of obtaining accurate  information i n  a c a v i t a t i o n  




Measurements i nd ica t e  t h a t  the  water content  of "dry" mercury 
, as used here in  i s  l e s s  than 15 ppm, and the  gas content  0 .2  t o  0 . 5  ppm 
of a i r .  
3 .O EXPERIMENTAL DATA 
0 
j_ 
3 . 1  Measurements and Data Reduction 
3 . 1 . 1  Q u a n t i t i e s  Measured 
For a l l  damage runs,  t he  following q u a n t i t i e s  have been observed 
3 
and recorded. 




P i t  t abu la t ion  according t o  number and s i z e  ( four  s i z e  
ca tegor ies )  
Unusual p i t  formations recorded by photomicrographs. Composite 
photomicrograph (and sometimes "macros") of  e n t i r e  pol ished su r -  
f ace  made i n  some cases. Metallographic c ross -sec t ion  p i c t u r e s  
taken through damaged areas i n  some ins t ances .  
3 .1 .2  Numerical Data Reduction 
The present  repor t  i s  concerned p r imar i ly  with the  numerical 
(quan t i t a t ive )  da t a .  The qua l i t a t ive  p i c t o r i a l  aspec ts  of the  damage 
have been discussed a t  length i n  a previous repor t  and paper t o  be 
presented .  New information r e l a t ed  t o  these  sub jec t s  w i l l  be covered 
i n  fu tu re  r e p o r t s .  
3 
4 
All the  numerical damage da ta  has been processed by an IFM 7090 
program. The following i t e m s  are  l i s t e d  i n  the  numerical output :  
i) Specimen number and mater ia l ,  
i i )  Throat v e l o c i t y  and degree of c a v i t a t i o n ,  
8 
9 
i i i )  
i v )  
v )  
v i )  
v i i )  
v i i i )  
ix) 
x) 
x i )  
Cumulative dura t ion  t o  time of specimen examination, 
Number of p i t s  i n  a l l  s i z e  ca t egor i e s ,  
Mean depth of penetration* as ca l cu la t ed  from p i t  count,  
Percent of a r e a  damaged ( i . e . ,  t o t a l  p i t  sur face  a rea  divided 
by t o t a l  sur face  a r e a ) ,  as ca l cu la t ed  from p i t  count,  
Mean depth of pene t ra t ion  r a t e  from p i t  count ,  
As i t e m  (v) ,  but calculated from measured weight loss and 
dens i ty ,  
As i t e m  (v i )  , but ca lcu la ted  from weight l o s s  and dens i ty ,  
As item ( v i i ) ,  but ca lcu la ted  from weight l o s s  and dens i ty ,  
Measured weight loss.  
I n  add i t ion ,  the  program has generated p l o t s  of mean depth of penetra-  
t i o n ,  and i t s  r a t e  ( i . e . ,  time der iva t ive) ,  versus  dura t ion  f o r  a l l  
samples t e s t e d .  Items ( iv)  through ( v i i )  are not included i n  those 
cases  where some por t ion  of  the  polished sur face  has become too p i t t e d  
t o  allow indiv idua l  p i t s  t o  be dis t inguished.  T h i s  s i t u a t i o n  genera l ly  
occurs r a t h e r  e a r l y  i n  the  mercury t e s t s  where the  damage i s  qu i t e  rap- 
i d ,  and only much later,  i f  a t  a l l ,  i n  t he  water t e s t s .  
I n  genera l ,  the  water t e s t s  a r e  conducted t o  a cumulative dura- 
t i o n  of 100 hours,  although longer and s h o r t e r  durat ions have been used 
i n  some cases .  For the  mercury t e s t s  50 hours has been standard f o r  
most cases ,  although some much longer and s h o r t e r  durat ions have been 
used. The samples a r e  inspected genera l ly  a f t e r  the  following cumula- 
t i v e  durat ions:  1, 4 ,  7, 10, 20, 30, 40, 50, 75 ,  and 100 hours, both i n  
~~ ~~ 
*Based on weight loss, densi ty ,  and t o t a l  exposed a rea .  
10 
water and mercury. I f  the  run i s  continued a f t e r  100 hours the  i n t e r v a l  
f o r  inspec t ion  genera l ly  remains a t  25 hours up t o  seve ra l  hundred hours,  
and then may be increased t o  50 hours. 
Since the  ven tu r i  design used i n  the mercury f a c i l i t y  has two 
specimen loca t ions ,  pairs  of specimens of a given material a r e  run 
toge the r .  I n  the  water f a c i l i t y ,  t h ree  loca t ions  a r e  ava i l ab le  i n  each 
v e n t u r i ,  and three  ven tu r i s  a r e  operated together  i n  p a r a l l e l .  Hence, 
2 
t he re  are nine specimen locat ions ava i l ab le  i n  a given run,  i . e . ,  a t  the  
same v e l o c i t y  and degree of cav i t a t ion ,  so  t h a t  f o r  each ma te r i a l  and 
ope ra t ing  condi t ion  there  are generally th ree  hopeful ly  i d e n t i c a l  
specimens. 
3 . 2  Mater ia l s  Tested 
The ma te r i a l s  t o  be t e s t ed  have been chosen i n  some cases  
because of t h e i r  present  technological importance and i n  o thers  because 
of t h e i r  range of physical  and mechanical p rope r t i e s ,  des i red  t o  give 
the  necessary scope and breadth t o  the inves t iga t ion  t o  a s s i s t  i n  
improving the  understanding of  the cavi ta t ion-eros ion  phenomena. 
The ma te r i a l s  t e s t ed  t o  date  i n  mercury a re :  
Type 302 s t a i n l e s s  s t e e l  (annealed) i )  
i i )  lOlO* carbon s t e e l  (annealed) 
i i i )  P lex ig las  
iv )  Cb - 1% Z r  a l l o y  
v)  Ta - 1OW 
v i )  Ta - 8W - 2Hf 
Actual ana lys i s  shows 0.08% carbon. * 
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whereas the  materials t e s t e d  t o  the present  i n  water, and f o r  which d a t a  
is a v a i l a b l e ,  include a l l  those t e s t ed  i n  mercury, and i n  add i t ion :  
Pure copper i n  th ree  d i f f e r e n t  heat-treats--cold-worked, high 
temperature anneal,  and low temperature anneal ,  
70/30 Brass i n  three  d i f f e r e n t  h e a t - t r e a t s  as above, 
Aluminum - type 6061-T6 
The materials ye t  t o  be t e s t ed  i n  water include: 
Copper-nickel a l l o y  i n  three h e a t - t r e a t s  as above , 
Pure n i cke l  i n  th ree  h e a t - t r e a t s  as above, 
Three aluminum a l loys  including pure aluminum ful ly-annealed,  
and a l s o  two wrought a l loys  of d i f f e r i n g  mechanical p rope r t i e s .  
The appl icable  mechanical p rope r t i e s  of a l l  the  materials 
involved, as f a r  as they are know t o  the  p re sen t ,  are l i s t e d  i n  Table 1. 
A program t o  measure c e r t a i n  required add i t iona l  mechanical p rope r t i e s  
i s  cont inuing.  
3 . 3  Flow Conditions 
The flow condi t ions capable of v a r i a t i o n  a r e :  geometry, degree 
of c a v i t a t i o n  (extent  of cav i t a t ing  r eg ion ) ,  and th roa t  v e l o c i t y .  A l l  
t h e  damage t e s t s  t o  the  present  have been conducted i n  v e n t u r i s  with 
contour ,  a s  shown i n  Figure 1, and wi th  nominal 1 / 2  inch t h r o a t  diam- 
e t e r .  As previously mentioned, the water v e n t u r i s  used i n  the  present  
water f a c i l i t y  have three  specimen pos i t i ons  whereas those used i n  the  
mercury f a c i l i t y ,  only two. However, t he  e a r l i e s t  water tests,  some of 
t h e  data from which are included, were conducted i n  t h e  present  mercury 
12 
T A B L  
PHYSICAL PROPERTY DATA FOR MATERIALS RUN I N  LAB0 
Tens i l e  0 .2% Yield 
Density S t rength  S t rength  
Mater ia l  Condition (n/cm3) ( p s i )  ( p s i )  
S t a i n l e s s  
S t e e l  ( 3 )  
300 Series  
Carbon 






Aluminum ( 2 )  
6061-T6 
Ta-  1Ow 
(A) 





Z i r c on ium (C ) 
Mo lybedenum- 
1 / 2 %  Titanium(E) 
Tenelon (F) 
Titanium (G) 
P lex ig las  (P) 
70/30 Brass (cz) 
70/30 Brass 
As Received 






Co Id -Worked 
60% C .W .(As Rec'd, 
850°F.. Anneal .* 
S m a l l  Grain S ize  
7 ,85a 95,200 
7.85 50 , OOOb 
14,300 
2 .77  13, OOOb 
70,300 
2 . 7 7  70 , OOOb 
45 , 000 
2 . 7 7  45, OOOb 
17.655 88, 100d 
80 , 900 
17.655 123 , 200d 
89 , 250 
8.72 29 , 300d 
8.72 
10.215 94, 700d 
7.810 131,750 
4.52 117 , 300 
1.23 10 , 445b 
, )  8.610 93,850 






















E l  
RATORY FOR FLUID FLOW AND HEAT TRANSFER PHENOMENA 
S t r a i n  Bending 
% Elong . % Red Energy t o  Fat igue E l a s t  i c  











































85 B H N ~  
23 B H N ~  
120 B H N ~  

























107 cyc les  
25,000b 
10 cyc les  
5 ,  OOOb 
20,  OOOb 
14, OOOb 
61,500d 








12 9x lo6 
1 2 X 1 O 6  







Tens i le  0.2% Yield 
Density S t rength  S t rength  
Mater ia l  Cond i t  ion  ( q / c m  3) ( p s i )  ( p s i )  
70/30 Brass 
( 4  OFHC Copper 
OFHC Copper 
OFHC Copper 
70/30 Copper  
-Nickel (cn) 
70/30 Copper 
-N ick  1 
70/30 Copper 
-Nicke 1 





Large Grain S ize  
60% C . W .  ('As Recvd) 
900°F. Anneal .* 
Small Grain S ize  
1500°F. Anheal. 
Large Grain S ize  
* 
2300°F. Anneal .* 
Small Grain S ize  
1800°F. Anneal .* 
Large Grain S ize  
75% C .W.  (As  Rec'd) 
llOOOF. Anneal .* 
Small Grain S ize  
1600°F. Anneal .* 































aUnless otherwise noted the va lues  i n  t h i s  t a b l e  have been meas- 
bTypical Handbook va lues .  
'Converted Value. 
dPersonal communication from G .  M .  Wood, P r a t t  & Whitney A i r -  
e 
BHN(5) --equivalent t o  BHN-500 kg 
BHN(3) --equivalent t o  BHN-300 kg 
* 
Calculated from handbook da ta  by C . A .  S i e b e r t  , Univers i ty  of 




% Elong , % Red Energy to  Fatigue Elast ic  
i n  2 i n .  Area Hardness Failure Strength Modulus 
58:9 51.7 67.4 RH 15,250 16 x106 
104 BHN( 5) 
6.17 19 18 58.6 RB 3,125 
71.2% 
51.3 48.5 28.3 RB 13,900 
55.7 RH a 32.5 33.2 6.4 RE 6,080 





34.9 43.5 76 BHN(5) 16,300 22 x106 
34.4 34.4 56 BHN(5) 13,750 22 x106 
3.9 10.2 173 BHN(5) 3,200 
43.8 51.6 55 BHN(5) 18,300 
30 x106 
30 x106 
41.8 49.7 80.3 RH 16,125 30 x106 
ured i n  t h i s  laboratory. 
0 craf t  Company. 
Michigan. 
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f a c i l i t y  using a two-specimen ventur i .  S t a t i c  pressure p r o f i l e s ,  meas- 
ured along the  v e n t u r i  w a l l  and along the  pol ished f ace  of  a s p e c i a l l y  
instrumented damage specimen, ind ica te  t h a t  the  change i n  channel- 
blockage caused by the  add i t ion  of a t h i r d  damage specimen a l ters  t h e  
flow s i g n i f i c a n t l y .  This difference has  a l s o  been noted from v i s u a l  
observa t ion  of t h e  c a v i t a t i n g  region, so t h a t  although the same names 
are used t o  descr ibe  the  c a v i t a t i o n  condi t ions  i n  the  two types of ven- 
t u r i s ,  t h e i r  s ign i f i cance  i n  terms of pressure  p r o f i l e s  and v i s u a l  
appearance i s  d i f f e r e n t .  This  s i t u a t i o n  i s  descr ibed i n  g r e a t e r  d e t a i l  
i n  t h e  sec t ion  d iscuss ing  the  normalized damage r e s u l t s ,  where t y p i c a l  
pressure  p r o f i l e s  are included. The d e f i n i t i o n s  of the  c a v i t a t i o n  con- 
d i t i o n s  (degrees of  cav i t a t ion )  for  both types of v e n t u r i  are l i s t e d  i n  
the  Appendix. 
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Aside from the  number of  t e s t  specimens, t h e  geometry f o r  a l l  
tests us ing  the  p la te - type  specimens has  been the  same. For t h e  few 
t e s t s  using a pin-type specimen, there is  the obviously s u b s t a n t i a l  
change i n  flow p a t t e r n  due t o  that  type of obs t ruc t ion .  This  w i l l  be 
descr ibed i n  g r e a t e r  d e t a i l  i n  a l a t e r  s ec t ion .  
The f i n a l  flow v a r i a b l e  i s  t h e  th roa t  ve loc i ty .  I n  the  mercury 
tes ts  t h i s  has been var ied  over the approximate range between 24 and 64 
f t . / s e c .  The lower l i m i t  i s  set by t h e  requirement,  d i c t a t e d  by f a c i l -  
i t y  design,  
about one atmosphere. The upper l i m i t  i s  set  by ava i l ab le  pump head. 
2 
nf a n i~ imum pressure recovery i n  the  v e n t u r i  d i f f u s e r  of 0 
In the  water f a c i l i t y  t h e  v e l o c i t y  range i s  from about 64 t o  200 
f t . / s e c .  Again, the lower l i m i t  is  set by minimum requi red  pressure 
recovery i n  the  d i f f u s e r ,  and t h e  upper l i m i t  by ava i l ab le  pump head and 
17 
pressure c a p a b i l i t y  of t he  equipment. Thus the re  is  a s l i g h t  overlap i n  
v e l o c i t y  between the  mercury and water t e s t s .  
3 . 4  Experimental Resul ts  
3 . 4 . 1  Summarization of Numerical Data 
The f u l l  de t a i l ed  tabulated IBM r e s u l t s ,  t o  the  present ,  pre-  
v ious ly  descr ibed,  a r e  not included here in .  However, they a r e  ava i l ab le  
and w i l l  be eventua l ly  included i n  a r epor t  when the  f u l l  t e s t  program 
as p resen t ly  envisioned i s  completed. A l l  specimens a r e  l i s t e d  i n  
Tables 2 and 3 f o r  mercury and water r e spec t ive ly ,  showing the  mean 
depths of pene t ra t ion  a t  50 and 100 hours ,  and f o r  s e l ec t ed  longer dura- 
t i o n s  when ava i l ab le .  I n  addi t ion ,  an approximate sketch of the  mean 
depth of pene t ra t ion  r a t e  versus  durat ion curves (taken from the  IBM- 
generated curves) are included t o  show t h e  genera l  t rends .  The ampli- 
tudes shown on these  curves a r e  approximately t o  sca l e  f o r  a given 
curve, but no sca l ing  of amplitudes between curves has been attempted. 
The numerical da t a  i s  averaged and consol idated f o r  each ma te r i a l  i n  
Tables 4 and 5. 
' 
3 . 4 . 2  Mean Depth of Penetrat ion v s .  Duration, 
a .  Mercury Tests 
The mean depth of penetrat ion f o r  a l l  the  "Standard Cavi ta t ion" 
0 mercury t e s t s  t o  da te  a re  p l o t t e d  i n  Figure 6 as a funct ion of t e s t  dur- 
a t i o n .  Each curve represents  averaged da ta  from the two specimens run 
toge ther .  As noted, the  longest durat ion achieved t o  da te  i s  800 hours. 
There a r e  s ing le  runs a t  300 and 250 hours a l s o ,  but the  majori ty  a re  i n  
the  50 t o  100 hour range. The t o t a l  of the  specimen hours represented 
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TABLE 2 
MEAN DEPTH OF PENETRATION FOR SPECIMENS AT 
SELECTED DURATIONS FOR MERCURY 
- 
Vel. Sketch 
Spec. Hg f t /  Cav. MDP After X Hours O f  Rate 















6 4 - 1  
6 5 - 1  
22 
23 
6 - 3  
7 -3  
47 -3 
48-3 




87 -3  
ss 
I 1  
11 
I t  
I 1  
II 




I t  
II 
11 
I 1  
cs 




I 1  
I 1  
I 1  
I1  
11 
I 1  
I 1  
I 1  
I 1  
Co Id 
-Wet 
1 1  
I 1  





I 1  
I 1  
I 1  
I 1  
I t  
I 1  
11 




I 1  
11 
11 
I 1  
I 1  
II 
11 




I 1  
3 4  




I 1  
I 1  
11 
I 1  
I1  
II 





I 1  
I 1  
II 
I 1  
II 




I 1  
S t d .  
II 
Zero 
I 1  
I 1  
I 1  
V i s .  
I t -  
I 1  









S t d .  
I 1  
I t  
11 
11 
I i  
I1  
I 1  
I t  
I 1  
55 70 145 
65 85 180 
0 
0 
0 ( 10 hr) 
0 ( 10 hr) 
3 6  
2 3 .5  
3 . 5 ( 2 5  hr) 
0 . 5 ( 2 5  hr) 
4 5  
6 6  
0 . 4 ( 2 5  hr) 
3 ( 2 5  hr) 
130 300 





40  100 130 650 730 
60  150 180 530 600 
17 (10 hr) 




3 .O No data  
1 9  
TABLE 2-- (Continued) 
I_ 
Vel. Sketch 
MDP Af ter  X Hours O f  Rate Spec. Hg f t /  Cav. 
No. M a t ' l .  Cond. s ec .  Cond. 50 100 200 500 800 Curve 
102-3 SS Dry- 34 S td .  2 .8  No data 
!I 500°F I' 11 89-3 
II 500°F 'I 11 90 -3 
114-3 Cold I 1  
118-3 




II 2 4 . 5  
24.5 I 1  
4.7 8 . 0  11.5 12.0 Insuf f i- 
4.7 5 .5  7 .3  8.7 
-Dry c i e n t  Data 
II L 
L 




11 II II II 
0 
77 No data 11 11 ? II 
11 ? 70-1 II 
3 P lex .  Wet- II 
4 II 11 I 1  
Cold 
11 I t  II 5 
II II 1 CBZR 
c .w . 
8 CBZR II II 
Anne a 1 e d 
11 II 5 CBZR 
47 II 
270 (7 hr)  11 
400 500 2100 
(7  h r )  (10 h r )  (25 hr)  
200 450 2400 





100 520 1 1  
100 200 II 
Annealed 




6 CBZR II 11 11 
4 A 
5 
II II II 
II II II II 
0 4  B 
II II iI 35 83 
27 49 
'I Back 20  66 
40 125 
11 II II II 5 
66-3 S S  11 
67 - 3  
115-3 II 11 II I 1  
116-3 11 II I 1  
11 II II II 
3.7(10 h r )  









V e l .  Sketch 
S p e c .  Hg f t /  Cav. MDP Af te r  X Hours Of Rate 
NO.  Mat'l. Cond. sec .  Cond. 50 100 200 500 800 Curve 
69-3 SS Wet- 34 1st M O(4 hr)  
O(4 hr)  70-3 
Co Id 
I1  II II II 
71-1 C / S  48 Nose 420 
11 CBZR 
I 1  20 
14 11 










I 1  
11 
II 
I 1  
11 
I 1  
11 
I t  
I t  59-3 
II 11 
11 II 11 
Std. 11 
II 11 I 1  
6 4  Zero 
11 I 1  11 
vis .  II 
11 11 II 





O(1.0 hr)  






110 160 374 
13 13 106 
4 










786(300 hr)  L E ! L  
602(300 hr)  No good ' 




MEAN DEPTH OF PENETRATION FOR SPECIMENS AT 
SELECTED DURATIONS FOR WATER 
Spec. Heat Vel. Cav. PElP Af t e r  X Hours 
No. Mat'l. Trea t  f t  / sec  Cond. 50 100 200 Rate Curve 
4 - 3  ss AS Recd. 65 S t d .  .35 .60 2.6 Typical* 
5-3 I 1  I 1  11 I 1  .35 .80 1.8 I t  
9-3 I 1  II I 1  1 . 7  2.3 II 
10-3 'I II II 
14-3 1 1  II 11 II 3.2 6.0 7.0 II 
I 1  
II .9 0 0 
15-3 I' 
@ 1 7 - 1  CS 
2.0 2.0 5.0 II 11 II II 
II II 17.0 30.0 48.0 Typical II 
except 30 h r  
II II II 23.0 35.0 65.0 incubat ion.  19-1 
30.0 35.0 70.0 10 h r  incu- 31-1 I' 
13.0 14(75 Hr) 16 C Z  
9 .0  12(75 Hr) 17 
4.0 9(75 H r )  18 II 
4.8  5.0(75 Hr) 88 
4.8 5.0(75 Hr) 89 
11 11 11 
bat ion .  
I1  11  t! II 
I t  II II I t  I 1  
11 II II II 
II II I 1  Low - 
Grain 
II 
II I t  Sma 11 I t  I 1  
90 11 11 II I 1  3.5 5.8(75 Hr) II 
238 1 1  High- 11 11 8.5 10.5(75 Hr) I1  
11 Large I 1  11 6.5 9.5(75 Hr) I t  
Grain 239 
240 
1 cu A s  Recd. I' 13.0 
9.5 2 
10.0 3 
II ll I 1  I t  II 9.0 12.0(75 Hr) 
II II 
11 11 1 1  I t  II 
11 II 11 11 1 &- 
19 
10 
II II Low - 
Grain 
I 1  76 





II II II 11 78 
1 5 1  
152 
153 
11 I t  High- 
Grain 
11 
11 Large 11 11 






Spec. Heat V e l .  Cav. MDP A f t e r  X Hours 







85 C Z  0 86 II 
















I 1  
II 
II 
I t  
11 155 
II 156 
2-2 A 1  
8-2 I 1  
9-2 II 
0 13 cz 
11 14 
11 15 
7 2 - 3  SS 
73-3 
108-3 
97 S t d ,  7.0 7.5 10.0 Typical 
II 1.0 1.5 4.0 None given II 
I1 22 22 30 Typic a 1 II 




Sma 11 I 1  
Grain 






A s  Recd. I' 
II II 
II II 










I 1  
II 
I 1  
II 
I 1  
II 
II 
Large II I 1  
Grain 11 II 
11 II I t  
II 11 
11 I 1  
II II 
II As Recd. 'I 
I 1  11 11 
I t  11 I 1  
200 
11 11 
11 I t  
80 100 130 
100 125 145 




8 . 5  







6 .5  
11 .o 
10 .o 
65 70 85 
50 60 75 
60 70 85 
18 22 
1 2  15 
11 14 
2.0 3.0 
3.0 4 .5  
1 . 5  2 . 5  






I 1  
II 
II 
I t  
I 1  
I 1  
None 
T yp i c a  1 
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TABLE 3-- (Continued) 
Spec. Heat Vel. Cav. MDP Afte r  X Hours 






7 7  














0 2  
c z  
11 
II 
I 1  
I1  








I 1  
11 
I f  
I 1  
11 
11 
I 1  
I t  
Alloy 
A 
I 1  
Alloy 
B 
I 1  
As Recd. 
I 1  
I 1  
11 








































































f o r  30 h r s .  
II 
Big jump a t  











Spec. Heat Vel, Cav. MDP Af te r  X Hours 































I 1  
I 1  
C Z  
11 
11 




I t  
11 
cu 
I 1  
I 1  
11 
I 1  
11 
I 1  
I 1  
I t  
C Z  
II 
II 


















A s  Recd. 
I 1  
11 
11 







A s  Recd. 
I 1  
I 1  
I 1  







1 1  
I t  
200 
II 
I 1  
I 1  
II 
I 1  





I 1  
11 
I t  
11 









1 1  
I t  
I 1  
II 
I 1  
I 1  









I 1  
I 1  










V i s .  




1 1  
I t  
11 
I 1  




















































Typica l  











I 1  






Double Hump **** 




Double Hum ***g 
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TABLE 3 - - (Continued) 
Spec. Heat V e l .  Cav. MDP Af te r  X Hours 
No. M a t ' l .  Trea t  f t / s e c  Cond. 50 100 200 Rate Curve 











I 1  1 1  I t  I t  
11 I 1  Low - 
Grains 
I 1  
II Small I t  II 
11 11 I 1  11 
- -  *** 
Double Hump 
Typical 
I 1  
11 
I 1  11 I 1  16 I 1  High- 163 
11 
13 
I t  Large 11 11 
Grains a 164 
166 I t  I t  II 11 
11 
11 
* Means very e a r l y  maximum and then decrease and no appreciable  
incubat ion per iod unless  so s t a t e d .  
** Extrapolated from 30 hours t o  50 hours. 
** 
Extrapolated from 75 hours t o  100 hours.  
JM-lr* 
Second hump near ly  as big a s  f i r s t .  
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TABLE 4 
CONSOLIDATED DATA FOR MEAN DEPTH OF PENETRATION FOR MERCURY 
Specimen Vel. Cav. MDP (Avn.) 
1 , 2  ss Wet-Cold 24 S td .  60.0 78.0 162.0 
Numbers Mat'l.  Ha Cond. f t / s e c  Cond. 50 100 - 200 
49,50,84,99 I 1  
63,64,107,113 11 
11,12,53,55 11 
34 v i s .  2.5 4 .8  
'I Nose 4.0 5 .5  
Zero 0 .o> lo 
64,65 cs 'I Nose 105.0 290.0 
22 , 23 
78,112,81,82 * 47,48 
11 
105 .O 
'I Std.  52.0 125.0 155.0 
CbZr(CW) 1 1  I 1  I 1  
6,7,47,48,71, SS I 1  
590.0) 500 665-0) 8oo I 1  11 I 1  11 
87,102,114,118 'I Dry-Cold 3.8 6.8 9.4 II 
24.5 II Hot-Dry 11 89 , 90 
61 , 68 cs Wet-Cold 150.0 205.0 I1  
3 ,4 ,5  Plex. II I 1  290) 7 475) 225s)-25 
1 , 8  CbZr (CW) 
5Y6 CbZr (Anneal .) 
4Y5 Ta-  1OW 
4Y5 Ta-1OW-2Hf 





11 11 II 
II I 1  
I 1  I 1  11 
11 11 11 
66 , 67 ss 
69,70 I t  
Back 30.0 96.0 
1st M .  
11 
O> 4 
I t  
7 1  cs 48 Nose 420 .O 
65 .O 11 , 20 CbZr 
I' Std.  202 .o 
11 
11 II I 1  
14,25 11 II 
60 , 62 ss 
43 , 54 11 
11 56 , 57 
51 , 52 
58 , 59 
011 64 Zero 
I 1  
Vis. 3 .3  
Nose 15.0 24.0 
'I Std.  60.0 84.0 
I 1  
I1 
I! 
I I  Back 8 .5  
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TABLE 5 
CONSOLIDATED DATA FOR MEAN DEPTH OF PENETRATION FOR WATER 
Spec imen Vel. Cav. MDP (avn.1 
Umbers Mat ' l .  Heat Trea t  f t / s e c  Cond. 50 100 200 
4 5 9 9 10 ss Anne a led  65 Std .  1.4 1.6 2.7 
14,15 
23.0 33.3 61 .O II 11 I 1  17,19,31 cs 
88,89,90 11 
16,17,18 C Z  As  Rec'd. I 1  8.7 11.7)75 
Sm. Grain 11 11 4.9 6.1)75 
8.0 10.7)75 238,239,240 Lg .Grain 
11 
I 1  11 
1,293 c u  
76,77,78 I 1  
11.0 
11.5 
A s  Rec'd. I 1  11 
Sm.Grain II II 

















C Z  
I 1  
II 
cu 
I 1  
11 
A 1  
ss 
c /s 
c z  
11 
II 
Annealed 97 10.0 10.3 14.7 11 
87.0 112 142 
14 17 
I 1  11 11 
A s  Rec'd. I 1  II 
4.5 Sm. Grain 
8.0 Lg .Grain 
10 .o A s  Rec'd. 
Sm.Grain 10.3 
Lg .Grain 9.2 
A s  Rec'd. 
Anne a l ed  200 
II 11 
11 I 1  
11 I 1  
58 67 82 11 I 1  





II I 1  
I 1  11 As Rec'd. 
Sm. Grain 
Lg .Grain 




7,839 cu A s  Rec'd. II 11 
0 82,83,84 I 1  Srn .Grain 11 11 
27 
11 14 
11 II 157,158,159 Lg .Grain 
Alloy A Annealed I 1  I 1  1,2,3 
1,2,3 Alloy B 11 I 1  I 1  6.7 8.3 
15,17,21 CbZr 20 24 II 11 I 1  
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TABLE 5--  (Continued) 
Spec imen Vel. Cav. MDP (avg.) 
Numbers M t ' l .  Meat T rea t  f t /sec Cond. 50 100 200 
7,8,9 C Z  As Rec'd. 200 Nose 27 32 
'I 16 21 7 9,80,81 
229,230,231 L g  .Grain 'I 17 22 
10,1L, 1 2  cu  
85,86,87 I t  
10,11,12 C Z  As Rec'd. I t  
I 1  Sm.Grain 11 
I 1  
" 30 
33 
" 2 8  
A s  Rec'd. II 
Sm.Grain 
160,161,162 L g  .Grain 
I 1  
I 1  
V i s .  16 20 
9 11 




(b 82,83,84 11 11 11 Sm .Grain 
232,233,234 It L g  .Grain I 1  11 
13,14,15 c u  As Rec'd. I 1  I t  
Sm .Grain 88,89,90 
163,164,166 I'  L g  .Grain 
11 I t  
11 11 
I1 
-- Momenc l a t u r e  
ss sl 
c I S  Ip 
C Z  ¶ 
cu m 
A I  U 
Alloy  A = 
Alloy B = 
CbZr ta 
AS Rec'd. - 
Sm. Grain = 
L g .  Grain = 
s t a i n l e s s  s tee l  
carbon s teel  
b ra s s  
copper 
aluminum 
Refractory a l l o y  "A" = Ta-1OW 
Columbium - 1% Zirconium 
= Ta-8W-2Hf II I t  llBll 
Intermediate  g ra in  s i z e ,  "as received." 
Low heat  t r e a t  (annealed a t  850°F) 
Nigh ( 'I 1400 OF) 
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on the  curve i s  about 3500, and s u b s t a n t i a l  add i t iona l  t e s t  hours have 
been accrued i n  mercury f o f  t h e  other degrees of c a v i t a t i o n .  
Figure 6 shows the  e f f e c t s  of ma te r i a l ,  v e l o c i t y ,  f l u i d  condi- 
t i o n  (temperature and water content)  and dura t ion  f o r  a given degree of 
c a v i t a t i o n .  It i s  noted i n  genera l  t h a t  the  damage rate f o r  a given 
ma te r i a l ,  condi t ion ,  e t c .  i s  not uniform with t ime, but r a t h e r  shows a 
* Jrk high r a t e  i n i t i a l l y ,  followed by a reduced r a t e  and again an inmeas -  
ing r a t e .  The longest dura t ion  t e s t  shows s i x  or  seven d i f f e r e n t  high- 
r a t e  regions.  It i s  noted t h a t  the last f i f t y  hours of t h i s  t e s t  a r e  
f o r  "dry mercury," and ye t  t h e  increase i n  damage during t h i s  i n t e r v a l  
i s  somewhat g r e a t e r  than t h a t  f o r  the preceding i n t e r v a l  of the  same 
dura t ion .  
only about l / lO th  as damaging a s  "wet," i t  may be t h a t  t h i s  l a s t  t e s t  
Since i n  o the r  t e s t s  i t  has been found t h a t  ''dry'' mercury i s  
increment represents  another high r a t e  of damage per iod f o r  these  spec i -  
mens. The cont inua t ion  of t h e  long dura t ion  test  wi th  "dryg1 r a t h e r  than 
"wet"  mercury, a s  used f o r  the  remainder of the  t es t ,  was an e r r o r  made 
before  it was r ea l i zed  t h a t  there  was a s i g n i f i c a n t  d i f fe rence  between 
the  behavior of the  f l u i d  i n  these two condi t ions ,  
The d i f f e r e n t  damage i n t e n s i t i e s  r e s u l t i n g  from the  var ious 
tests a re  discussed i n  d e t a i l  i n  l a t e r  s ec t ions .  
5 .  Water Tes ts  
Figure 7 shows t y p i c a l  mean depth of pene t ra t ion  v s .  dura t ion  
da ta  f o r  the  water t e s t s .  The curves correspond t o  the  th ree  d i f f e r e n t  
"In genera l ,  no measurable "incubation period" e x i s t s  f o r  e i t h e r  
water o r  mercury tests.  This  i s  made p a r t i c u l a r l y  evident  by an examin- 
a t i o n  of t he  p i t  count records.  
** T k  3egative r a t e  sometimes shown may be due t o  sur face  adsorp- 
t i o n  of e i t h e r  mercury o r  water or o the r  impur i t ies .  
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h e a t - t r e a t  cosdi t ions  of pure copper and of brass  r e spec t ive ly ,  so  t h a t  
tkere  a r e  a t o t a l  of s i x  curves .  They apply only t o  the  t e s t s  f o r  200 
ft . / s e e .  and "Standard CsirPBatioun." 
to 100 hours,  the atandssd durz.t%o?l zdopted f o r  t h e  water t e s t s .  Even- 
tually similar curves for the  e n t i r e  s e r i e s  of water t e s t s  w i l l  be pre-  
sented i n  t h i s  fashion.  
AB1 these  t e s t s  have been completed 
The present  water curves i l l u s t r a t e ,  as do the  mercury curves,  
that  the  damage r a t e  i s  h ighly  non-linear showiag a very high r a t e  at  
the  s t a r t ,  which decreases subs t an t i a l ly  f o r  the remainder of the  test 
with water .  It i s  believed t h a t  the secondary "humps" a r e  not present ,  
as they were f o r  mercury, because the damage is  not s u f f i c i e n t .  (Mote 
comparison of v e r t i c a l  s c a l e s . )  
l o s ses  encountered i n  the  water t e s t s  (even though the  v e l o c i t y  i s  the  
order  of 6 times t h a t  i n  the  mercury t e s t s ) ,  the  proport ionate  p rec i s ion  
of t he  da ta  i s  much less and the  s c a t t e r  g r e a t e r .  
Because of t he  much smaller volume 
Fur ther  de t a i l ed  r e s u l t s  w i l l  be discussed in a l a t e r  s ec t ion .  
3 . 4 . 3  Mean Depth of  Penetration Rate Vs. Time 
a.  Present  Observations 
10 has been noted above that  f o r  both mercury and water ,  t he  
rate Qf damage i s  not uniform throughout t he  tes t ,  but r a t h e r  reaches a 
ve ry  high value almost immediately (without any observable incubation 
FesEsd). After  t h i s  i n i t i a l  high-rate  per iod,  the damage r a t e  f a l l s  
very s u b s t a n t i a l l y  and remains a t  a l o w  l e v e l ,  i x r e a s i n g  gradual ly ,  
over an extesded period. I f  the  t e s t  i s  c a r r i e d  t o  high enough l e v e l s  





Figure 8. (a )  Back S i d e ,  Polished Surface and Front Side of 
Specimen No. 47-3  (SS)  A f t e r  800 Hours Exposure t o  
Cavi ta t ion  i n  Mercury a t  a Throat Velocity of 34 
Ft./Sec.  , f o r  "Standard Cavitation11. 
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Figure 8. ( b )  Back S i d e ,  Polished Surface and Front Side of 
Specimen N o .  48-3 (SS)  A f t e r  800 Hours Exposure t o  
Cavi ta t ion i n  Merucry a t  a Throat Veloci ty  of 34 
F t .  /Sec. ,  For  "Standard Cavi ta t ion t t .  
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f o r  a photomicrograph of t he  previously discussed long dura t ion  mercury 
specimens*), the  r a t e  again increases t o  a high value.  
t he re  may be numerous peaks and va l leys  i n  the  r a t e  curve,  and i t  does 
not  appear t o  l e v e l  of f  a t  any f ixed va lue .  
Subsequently, 
The rate-curve sketches f o r  a l l  specimens, presented i n  Tables 
2 and 3 ,  show the  g r e a t e s t  port ion of t he  experimental evidence f o r  the  
above s ta tements .  I n  add i t ion ,  t he  ex is tence  of t h e  e a r l y  hump and the  
lack of a nuc lea t ion  per iod was fu r the r  i l l u s t r a t e d  very c l e a r l y  by a 
previously reported5 t e s t  ca r r i ed  out i n  water a t  t h i s  labora tory  using 
s t a i n l e s s  s t e e l  i r r a d i a t e d  test specimens. F i n a l l y ,  t he  mean depths of 
pene t ra t ion  computed from the tabulated p i t  counts show the  same shape 
of r a t e  curves ,  although the re  is a s u b s t a n t i a l  e r r o r  i n  amplitude which 
i s  p resen t ly  unexplained ( i . e . ,  the  p i t  count da t a  shows a much smaller  
mean depth of pene t ra t ion  than the  ac tua l  weight measurements). 
0 
b.  Proposed Explanation of Experimental 
Observations (Here and Elsewhere) 
On the  bas i s  of the  present evidence it  i s  believed t h a t  an 
i n i t i a l  hump i n  the  damage r a t e  vs. dura t ion  curve,  followed by a dimu- 
n i t i o n  of r a t e  which i s  i n  turn  followed by a gradual  increase  t o  one o r  
s eve ra l  subsequent humps may be a f a i r l y  common form of c a v i t a t i o n  
damage. 
It i s  bel ieved t h a t  the i n i t i a l  hump has been unnoticed by vari- 
ous previous inves t iga to r s  s ince  the t o t a l  accrued damage i n  t h i s  phase 0 
* 
From the  viewpoint of prec is ion  machinery a s  e . g . ,  pumps of e 
SNAP system, behavior of materials f o r  such damage l e v e l s  may be academ- 
i c  i n  t h a t  " f a i lu re"  f o r  t h a t  p a r t i c u l a r  app l i ca t ion  has a l ready 
occurred, i . e . ,  the  r e s i s t ance  of mater ia l s  t o  i n i t i a l  damage i s  of p r i -  
mary importance. 
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i s  sEa11. It was c a l l e d  t o  our a t t e n t i o n  i n  the present  tests both by 
the  observat ion of increas ing  numbers o f  p i t s  (for weight losses  t oo  
small f o r  p rec i se  d i r e c t  determination) i n  t h e  very  e a r l y  por t ions  of 
t he  tes ts ,  and by the  aforementioned t e s t s  with i r r a d i a t e d  specimens. 
The i lai t ial  hump c a m o t  be due t o  flow pe r tu rba t ion  by a roughened su r -  
f ace ,  s ince  the  sur face  i s  almcst undamaged during t h i s  por t ion  of the  
t e s t .  Hence, i t  must be due as s t a t ed  i n  an e a r l i e r  paper t o  the char -  
1 
a c t e r i s t i c s  of the  i n i t i a l  sur face  a s ,  f o r  example, the ex is tence  of 
inc lus ions  o r  o the r  i r r e g u l a r i t i e s  or "weak spots ' '  which a r e  e a s i l y  
removed." The cause of  t h e e a r l y  r a t e  decrease may also be a work- 
@ 
hardening of the  sur face  which has been shown t o  occur very e a r l y  i n  
c a v i t a t i o n  t e s t s  by X-ray d i f f r a c t i o n  tech-iques. Emewer, i f  t h i s  i s  6 
t he  case, it i s  only  a ve ry  shallow l aye r  which i s  a f f ec t ed ,  s ince  t e s t s  
conducted i n  t h i s  labora tory  wi th  the brass  and copper specimens using a 
microhardness indentor  showed no cons is ten t  change i n  hardness.  
Later  n o n - l i n e a r i t i e s  i n  the damage ra te  curve a r e  bel ieved 
almost e n t i r e l y  due t o  flow per turba t ion  caused by the  damage i t s e l f .  
It has been r ecen t ly  noted, f ~ r  exaxple, i n  magnetostr ic t ion t e s t s  
7 
t h a t  a hump i n  the  r a t e  curve QCCUPS a f t e r  s u b s t a n t i a l  damage (which 
roughly corresponds i n  damage magnitude t o  the  la te r  humps i n  the  mer- 
cury  specimen cu rves ) ,  and then that  t h e  r a t e  decreases  t o  an eventua l ly  
cons tan t  value (as  opposed t o  the present t e s t s ) .  Xt i s  bel ieved thak 
*An i n i t i a l  rounding of sharp corners  r a y  a l s o  be involved. 
Bowever, t h i s  i s  not the  complete explanat ion s ince  both p i t  counts or- 
the  pol ished sur face  and weight measurements show t h e  i n i t i a l  hump. 
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the  change i n  sur face  roughness as the tes t  proceeds i n i t i a l l y  r e s u l t s  
i n  an increase  i n  damage ra te  by increasing the a r e a  exposed, and i n  
bui ld ing  up s u f f i c i e n t  coldwork t h a t  f a t i g u e  f a i l u r e  becomes imminent 
across  the  specimen f ace .  Later on, t he  increased sur face  area and 
f a t i g u e  inechaaisms become "sa tura ted ,"  but a degree of  p ro tec t ion  t o  
the  su r face  i s  r e a l i z e d  by the  roughness i t s e l f ,  so t h a t  bubble c o l -  
l apses  gene ra l ly  are held a t  a d is tance .  Thus the  ra te  decreases  u n t i l  
a l l  opera t ive  mechanisms become "saturated,"  and the  ra te  becomes uni-  
form. However, the  magnetostr ic t ion t e s t  d i f f e r s  from flowing systems 
gene ra l ly  i n  t h a t :  
0 
i) The damage i s  e s s e n t i a l € y  uniform across  an area f ixed  by the 
apparatus  
ii) The bubbles a r e  of r e l a t i v e l y  uniform s i z e  and co l l apse  v io-  
lence , apparent ly  being incapable of c r e a t i n g  r e l a t i v e l y  la rge  , 
single-blow c r a t e r s  as sometimes observed, e . g . ,  i n  present  ven- 
t u r i  t e s t s  on materials ranging from aluminum t o  s t a i n l e s s  
s t e e l s ,  
Fis tead causi9.g a f a i r l y  uniform very  f i n e  p i t t i n g .  
1 
and in water tunnel t e s t s  on aluminum by K n a p ~ , ~  but 
* 
S Q K E W ~ ~ ~  d i f f e r e n t  but f a i r l y  similar arguments can be advanced 
to exp la in  the  ra te  curves from a r o t a t i n g  d i s c  apparatus ,  which a r e  
r a t h e r  s imilar  in form t o  those from the  magnetostr ic t ion f a c i l i t y .  
A f t e r  s u b s t a n t i a l  damage i s  incurred,  t he  flow p a t t e r n  i s  per turbed i n  
* 
Preliminary tes ts  i n  t h i s  laboratory t o  observe p i t t i n g  from 
magnetostr ic t ion-type tes ts  on f o i l s  of  very s o f t  material  so  f a r  tend 
t o  s u b s t a n t i a t e  these  s ta tements .  l4 
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such a manner t h a t  l o c a l  c a v i t a t i o n  is  induced by the  roughened sur face  
s o  t h a t  new a rea  i s  exposed t o  a t t ack ,  and the  ra te  of damage inc reases .  
However, t he  "new" areas become f u r t h e r  and f u r t h e r  removed from the  
inducer ho le ,  so t h a t  the a t t a c k  per u n i t  area i s  l i k e l y  t o  be l e s s  
severe as the  region spreads ( i . e .  , it  i s  "out-of-range" from the  
inducer h o l e ) ,  and the ra te  w i l l  presumably eventua l ly  decrease.  
Whether o r  not i t  w i l l  eventua l ly  reach a r e l a t i v e l y  constant  value as 
f o r  t h e  magnetostr ic t ion tests where t h e  exposed a rea  i s  f ixed  is  not 
ev iden t  nor experimentally demonstrated, t o  t h e  au tho r ' s  knowledge. 
The present  v e n t u r i  tests with the  "conventional" specimens 
0 
obviously d i f f e r  i n  d e t a i l  from the r o t a t i n g  d i s c  apparatus  tests i n  the  
i n t e r r e l a t i o n s  between the  exposed a rea  and the  c a v i t a t i o n  f i e l d .  How- 
ever ,  high-speed motion p i c t u r e  s tud ie s  of t he  flow and d e t a i l e d  exami- 
na t ion  of  t he  damage pa t t e rns  show t h a t  l o c a l  c a v i t a t i o n  c rea ted  by t h e  
specimens themselves, r a t h e r  than the o v e r a l l  c a v i t a t i n g  f i e l d ,  i s  prob- 
ab ly  very  important i n  the  production of  damage. Hence, the  ra te  of  
damage becomes dependent upon the f low per turba t ion  due t o  previous dam- 
3 
age, once t h a t  damage has become subs t an t i a l  (as opposed t o  the  i n i t i a l  
hump), much as i n  the  r o t a t i n g  d isc  apparatus .  However, t he  s i t u a t i o n  
i s  more complicated i n  t h a t  the major s i t e  of c a v i t a t i o n  i n i t i a t i o n  i s  
not s o  w e l l  known o r  loca l ized ,  s o  t h a t  the r e s u l t a n t  rate v s .  dura t ion  
curves could be expected t o  be (and apparent ly  a re)  more complex and 
less p red ic t ab le .  
a 
3 . 4 . 4  "Wet" v s .  "Dry1' and "Hot" v s .  "Cold" Mercury 
a .  Experimental Observations 
As previously ind ica t ed ,  the mercury used i n  the  major i ty  of the  
damage t e s t s  contained t r a c e  q u a n t i t i e s  of water (estimated a t  100 t o  
39 
1000 ppm), and w a s  a t  approximately room temperature .  However, when 
hea te r s  had been i n s t a l l e d  on the loop, i t  became poss ib le  t o  opera te  
wi th  mercury temperatures on the  order of 500°F. Since l i g h t e r  compo- 
nents  as gas o r  water are d isen t ra iced  i n  t h e  s t rong  c e n t r i f u g a l  f i e l d  
of t he  pump, opera t ion  a t  high temperature removed the  water almost 
e n t i r e l y  from the  mercury. 
gas q u a n t i t i e s  i n  mercury have been developed i n  t h i s  labora tory  i n  con- 
Methods of measuring en t ra ined  water and 
nec t ion  wi th  the  s tudy of t h e i r  e f f e c t  on c a v i t a t i o n  number. Hence, it 
has become poss ib le  t o  v e r i f y  t h a t  i n  the  "dry1' condi t ion  the water con- 
t e n t  of t he  mercury i s  less than about 15 ppm. Unfortunately no co r re s -  
ponding measurements are ava i l ab le  f o r  the  major i ty  of the  runs wi th  
"wet" mercury 
a t  t h a t  t i m e .  However, measurements taken r e c e n t l y  have shown t h a t  the  
water content  ranges from approximately 250 ppm t o  750 ppm and i s  v e l -  
o c i t y  dependent, because of the nature of the pump design.  A "dry" mer- 
cury damage run f o r  a p a i r  of  "conventional" s t a i n l e s s  s t e e l  specimens 
has so f a r  been carried t o  400 hours. Examination of Figure 6 i nd ica t e s  
t h a t  the  damage f o r  t he  "dry" mercury appears t o  be about a f a c t o r  of 10 
less than f o r  r r w e t ' '  mercury, o ther  tes t  cond i t ions  being the  same. Two 
a * 
drk 
s ince  the  method of measurement had no t  been conceived 
* Upon "drying" it was noted t h a t  the mercury w e t  the  s t a i n l e s s  
s t e e l  damage specimens much more e f f e c t i v e l y  than before  so t h a t  i t  was 
necessary t o  boi l -out  t he  specimens under vacuum t o  a t t a i n  t r u e  weight 
measurements. This  i s  taken as fur ther  evidence of the  almost complete 
removal of water.  
** 
I f  i t  tu rns  out t h a t  mercury damage r a t e  i s  very s e n s i t i v e  t o  
t h e  quan t i ty  of water i n  the  mercury, then  it may be t h a t  minor v a r i a -  
t i o n s  i n  t h i s  quant i ty  a r e  p a r t l y  respons ib le  f o r  some of the  non- 
l i n e a r i t i e s  i n  the  damage v s .  durat ion curves f o r  "wet"  mercury. N o  
conclusions i n  t h i s  regard can be drawn without f u r t h e r  data  on the  
e f f e c t  of water content .  
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add i t iona l  50 hour ''dry" runs wi th  s t a i n l e s s  s t ee l  have a l s o  been com- 
p l e t ed .  Weight l o s ses  from a l l  three sets agree c l o s e l y  a t  t he  50 hour 
po in t .  This  very s u b s t a n t i a l  increase i n  damage c a p a b i l i t y  t o  a non- 
cor rodib le  material caused by the  addition of  a small quan t i ty  of water 
t o  t h e  mercury i s  f u r t h e r  confirmed by observat ions on pin-type spec i -  
mens (to be descr ibed l a t e r ) ,  As noted i n  Table 7, t o  be discussed 
l a t e r ,  t he  pressure recovery on-the downstream end of  the  specimens i s  
much g r e a t e r  f o r  the  "wet" mercury and t h i s  may p a r t i a l l y  expla in  the 
0 damage r e s u l t s .  
A s ing le  high-temperature (500°F) damage run has been c a r r i e d  t o  
50 hours wi th  a p a i r  of s t a i n l e s s  s t e e l  ( type 302) specimens. Again, 
t he  mercury was necessa r i ly  "dry." Examination of  Figure 6 shows t h a t  
the damage a t t a i n e d  by t h i s  "dry-hot" run i s  of t he  same order  of mag- 
n i tude  as f o r  the  corresponding "wet-cold" run ( t h e  800 hour run) ,  i . e . ,  
it i s  much g r e a t e r  than f o r  t h e  "dry-cold" specimens previous ly  d i s -  
cussed.  It i s  of course planned t o  explore  the  e f f e c t s  of  high-tempera- 
t u r e  i n  a more comprehensive manner using longer dura t ions  and d i f f e r e n t  
specimens. However, t h i s  has not been accomplished as ye t .  
b. Proposed Explanations of Observations 
The experimental  observation i s  t h a t  "wet-cold" and "dry-hot" 
mercury are approximately equal ly  damaging t o  a material ( a u s t e n i t i c  
s t a i n l e s s  s t e e l )  whose mechanical proper t ies  do not d i f f e r  very g r e a t l y  
over  the  temperature range involved ( w 8 0  t o  500"F), and which i s  
* 
* According t o  da t a  published by U .S . Stee l ,13  t h e  u l t ima te  
Thus, very roughly, the  s t r a i n  energy 
s t r e n g t h  decreases by 0.76 over t h i s  range, the  y i e l d  s t r eng th  by 0 .6  
and t h e  elongat ion by 0.62. 
decreases  by about 0.76 x 0.62 .I 0 .5  over  t h i s  temperature range. 
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e s s e n t i a l l y  non-corrodible by water fo r  t he  temperatures and dura t ions  
involved. 
same material. 
combinations which seems I i k e l y  t o  be s u f f i c i e n t l y  s u b s t a n t i a l  t o  
exp la in  the  observed e f f e c t s  i s  t h a t  of vapor pressures .  
However, "dry-cold" mercury i s  very  much less damaging t o  the  
The only d i f fe rence  between these  var ious  f lu id -ma te r i a l  
The "hot-dry" mercury has presumably a vapor pressure  charac te r -  
i s t ic  of pure mercury a t  the ex i s t ing  temperature,  i . e . ,  d1.9 p s i a .  
The e f f e c t i v e  vapor pressure of t he  "cold-wet" mercury i s  presumably 
about t h a t  of  water a t  the e x i s t i n g  temperature,  i . e . ,  about 1 p s i a .  
Hence, these  are of the  same order  of magnitude, while  the  vapor pres -  
* 0 
su re  of "cold-dry" mercury i s  only a few microns. 
a decrease i n  vapor pressure (even though the  degree o f  c a v i t a t i o n  and 
Thus, i t  appears t h a t  
a l l  o t h e r  flow parameters are held constant)  r e s u l t s  i n  a s u b s t a n t i a l  
decrease i n  c a v i t a t i o n  damage. 
A cons idera t ion  of t he  dynamics of bubble growth and co l l apse  
i n d i c a t e s  t h a t  t he  inf luence of vapor pressure  might be two-fold. A 
higher  vapor pressure would promote nuc lea t ion  and growth, but i n h i b i t  
co l l apse ,  i n  t h a t  the  vapor would behave as a pe r fec t  gas under ad iaba t i c  
compression toward the end of co l lapse .  In a given flow and pressure 
regime, a higher  vapor pressure might r e s u l t  i n  an e a r l i e r  nuc lea t ion  
and more rap id  growth of bubbles,  leading t o  a l a rge r  maximum diameter,  
and, a s ide  from the  i n h i b i t i o n  of f i n a l  co l lapse  as mectioned above, a 
more ene rge t i c  and damaging co l lapse .  I n  t h e  present  i n s t ance ,  i t  
0 
Jk 
Confirmed by the f a c t  t ha t  t he  loop c e n t r i f u g a l  pump cav i t a t ed  
when t h e  mixture temperature approached the  s a t u r a t i o n  temperature f o r  
water a t  pump i n l e t  pressure.  
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appears t h a t  the  second mechanism i s  the  more important i n  t h a t  the high 
vapor pressure  f l u i d  i s  the  more damaging. 
Damage t e s t s  with en t ra ined  gas r a t h e r  than water would be of 
i n t e r e s t  i n  t h a t  the  co l lapse- inhib i t ing  mechanism would be presumably 
s t ronger  than with a vapor,  s ince  the gas would be a non-condensible. 
On the  o ther  hand, the  e f f e c t  upon growth would be l e s s  than t h a t  of a 
vapor,  s ince  the gas quant i ty  could not be increased by evaporation from 
the surrounding l i qu id  (and presumably gas d i f fus ion  e f f e c t s  would be 
r e l a t i v e l y  n e g l i g i b l e ) .  Consequently, i t  would be expected t h a t  t he  
e f f e c t  of en t ra ined  gas would d e f i n i t e l y  be t o  i n h i b i t  damage, and i n  
f a c t  it i s  known t h a t  the  i n j e c t i o n  of gas i n t o  c a v i t a t i n g  water up- 
stream of a turbomachine w i l l  indeed s u b s t a n t i a l l y  reduce damage. I n  
the  same connection, i t  has been noted i n  the  experiments i n  t h i s  €abo- 
r a t o r y  t h a t  i n j e c t i o n  of gas i n t o  the water loop w i l l  reduce the  sound 
l eve l  from cav i t a t ion  very s u b s t a n t i a l l y  and a l s o  produce a much s tead-  
i e r  c a v i t a t i o n  cloud. 
0 
While the  vapor pressure mechanisms are bel ieved of primary 
importance, o ther  parameters a f fec ted  s i g n i f i c a n t l y  by the  f l u i d  changes 
i n  these  t e s t s  a r e  sur face  tens ion ,  i n t e r f a c i a l  t ens ion ,  i . e . ,  the  
degree of wet t ing between mercury and s t e e l ,  and v i s c o s i t y .  The i n f l u -  
ence of these parameter changes i s  not known a t  p re sen t .  However, the  
su r face  tens ion  and v i s c o s i t y  values a t  the  appl icable  temperatures a r e  
shown i n  Table 6 .  Moreover, it may be tha t  t e s t s  of t h i s  type w i l l  
r e s u l t  i n  the  p o s s i b i l i t y  of damage i n h i b i t i o n  i n  c losed systems by 




SURFACE TENSION AND VISCOSITY FOR MERCURY* 
Temp era t ure Surface Tension V i S C O S i t Y  
80 "F 
500 "F 
0.03185 l b / f t  . 
0.02875 l b / f t .  
3.66 lb / f t -hr  
2.32 lb / f t -hr  
* WADD TR-6196 
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3 . 4 . 5  Flow P a t t e r n  Changes (Pin-Type 
Specimen Tes ts )  
The flow p a t t e r n  r e s u l t i n g  from the  i n s e r t i o n  of the  "conven- 
t i ona l "  p la te - type  specimens (Figures 2 ,  3 ,  and 4 )  i n t o  the  c a v i t a t i n g  
region of a v e n t u r i  i s  somewhat similar t o  c a v i t a t i n g  flow over t h e  
leading edge of a pump blade,  i . e . ,  a s u b s t a n t i a l l y  t r a n s l a t o r y  cavi -  
t a t i n g  flow wi th  a s i g n i f i c a n t  a x i a l  pressure g rad ien t .  As has become 
evident  from pump t e s t s  and from the present  ven tu r i  t e s t s ,  t h i s  is  not 
an extremely damaging type of flow. 
0 I f  a s t rong  v o r t i c i t y  i s  superimposed upon a t r a n s l a t o r y  flow o f  
the  type discussed above, so t h a t  the vor tex  impinges i n  a s u i t a b l e  
fash ion  upon a s t r u c t u r a l  member o r  t e s t  specimen, t h e  damage i n t e n s i t y  
may be increased by orders  of magnitude. This has become evident i n  
t e s t s  wi th  open-shrouded cen t r i fuga l  o r  mixed-flow impel le rs ,  where the  
leakage flow over the  blade t i p s ,  having a s t rong  v o r t i c i t y  and a l s o  
being i n  a s u b s t a n t i a l  pressure grad ien t ,  may impinge on the  following 
blade of the  impel ler  i t s e l f ,  and cause very s u b s t a n t i a l  damage. The 
r o t a t i n g  d i s c  f a c i l i t y  produces a somewhat similar and very damaging 
flow. It has been found i n  recent  t e s t s  i n  t h i s  labora tory  t h a t  a s i m -  
i l a r  s i t u a t i o n  can be c rea ted  i n  a cav i t a t ing  v e n t u r i  by the  i n s e r t i o n  
of a p i n  o r  cy l inder  with ax i s  normal t o  the  flow d i r e c t i o n  across  the  
v e n t u r i  d i f f u s e r .  
I n  the  present  ins tance ,  experiments were s t a r t e d  with such pin-  
0 
type specimens (Figure 5 )  , which were a c t u a l l y  thin-walled tubes,  t o  
develop a specimen capable of high degrees of precompression during a 
c a v i t a t i o n  t e s t  without buckling. However, it w a s  soon discovered t h a t  
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t he  ra te  of damage on such a specimen w a s  o rders  of magnitude g r e a t e r  
than  f o r  the  "conventional" specimens. Also, t h e  damage ra te  i s  ve ry  
s e n s i t i v e  t o  the degree of  cav i t a t ion .  
It i s  presumed t h a t  t he re  ex i s t s  an unsteady vaporous wake 
region behind the p in  i n  the reg ion  of the t r a i l i n g  v o r t i c e s ,  cons is t ing  
perhaps of more o r  less d i s c r e e t  vapor bubbles. 
ment of v e l o c i t y  and downstream pressure ,  these  bubbles can be caused t o  
co l l apse  on t h e  downstream por t ion  of t h e  cy l inde r ,  i n  which case ve ry  
in t ense  damage i s  caused. For a given ve loc i ty ,  t he  damage rate i s  very 
dependent upon the  pressure d i f f e r e n t i a l  across  the  p in ,  as t h i s  con- 
By a s u i t a b l e  ad jus t -  
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t r o l s  the  loca t ion  of bubble co l lapse ,  and the  d r iv ing  pressures  f o r  
co l l apse ,  i . e .  , a t  low back pressure t h e  t r a i l i n g  vo-itiesa collepse we?? 
i n t o  t h e  f l u i d  downstream of the  pin,  causing l i t t l e  damage. 
The f i r s t  p i n  tests were made wi th  "wet" mercury. It was found 
t h a t  wi th  a 34 f t . / s e c .  t h r o a t  ve loc i ty  and a s u i t a b l e  s e t t i n g  of the  
v e n t u r i  pressure d i f f e r e n t i a l ,  a hole completely through the  tu 20 m i l  
p in  w a l l  was crea ted  i n  5 hours.  Figure 9 shows a metallographic c ross -  
s e c t i o n  through t h i s  region.  Thus, t he  mean depth of pene t ra t ion  i n  
t h i s  p a r t i c u l a r  area was of the  order of 4000 micro-inches per  hour,  
whereas the  maximum rate  f o r  a "conventional" specimen a t  the  same v e l -  
o c i t y  and wi th  the same f l u i d  is of the  order  of 1 - 5 micro-inches/hour 
0 (Figure 6 ) .  
Subsequent t e s t s  w i th  "dry)' mercury showed a much smaller damage 
ra te ,  although s t i l l  la rge  as compared t o  "conventional" specimens, The 
previous ly  discussed la rge  difference i n  damage c a p a b i l i t y  between "wet" 
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Figure 9. Metallographic Cross-section through Stainless 
Steel Pin Specimen Wall, (a) Magnification 50X; 
(b) Magnification l O O X ,  Marbles Etch. 
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and 'Idry'l mercury i s  thus confirmed a l s o  f o r  the  pin-type specimens. 
No f u r t h e r  q u a n t i t a t i v e  r e s u l t s  f o r  t he  p ins  a r e  yet  a v a i l a b l e .  
However, i t  i s  apparent from the preliminary tests discussed above t h a t  
a very acce lera ted  c a v i t a t i o n  device could be made wi th  such specimens, 
p a r t i c u l a r l y  i f  "wet" mercury were used a s  the  f l u i d .  It is  a l s o  appar- 
en t  t h a t  the  combined t rans la tory-vor tex  flow p a t t e r n  c rea t ed  by a t e s t  
specimen of t h i s  type i s  very-damaging, an observat ion cons i s t en t  wi th  
turbomachinery tests.  
It i s  believed t h a t  a su i t ab le  specimen o r  obs t ruc t ion  in se r t ed  
i n t o  a c a v i t a t i n g  v e n t u r i  could c rea te  a flow p a t t e r n  c l o s e l y  analogous 
t o  t h a t  found t o  be damaging i n  turbomachines, and the  des i red  combina- 
t i o n  of ve loc i ty ,  v o r t i c i t y ,  and pressure grad ien t  could be obtained.  
Thus a valuable  tool f o r  the  r e a l i s t i c  study of prototype damage would 
be c rea ted .  
4 .0  NORMALIZED DAMAGE RESULTS 
4 .1  Numerical Procedures 
The p resen t ly  ava i l ab le  da ta  regarding mean depth of  pene t ra t ion  
(and i t s  r a t e )  f o r  a l l  runs i n  water and mercury are l i s t e d  i n  Tables 2 
and 3 f o r  var ious  f ixed  dura t ions .  Tables 4 and 5 summarize t h i s  da ta  
f o r  t h e  var ious  d i s t i n c t  f l u i d ,  mater ia l ,  and flow parameters,  again a t  
the f ixed  dura t ions  of 50, 100, 200, e t c .  hours where da t a  i s  ava i l ab le .  
A more comprehensive ana lys i s  and reduct ion of t he  da t a  w i l l  be reported 
a t  a l a t e r  da te  when the  series of  runs has been completed. A t  the  
p re sen t ,  i t  i s  only des i red  t o  obtain a f i r s t  look a t  the  r e s u l t s  i n  
such  a way t h a t  t he  e f f e c t s  of mater ia l ,  v e l o c i t y  and c a v i t a t i o n  condi- 
t i o n  can  be evaluated.  
For each d i s t i n c t  f l u i d ,  mater ia l ,  and flow regime combination, 
t h e  average mean depth of penetrat ion has been computed a t  50 and 100 
hours .  * These averages are then normalized by d iv id ing  by the cor res -  
ponding average mean depth of penetrat ion f o r  s t a i n l e s s  s t e e l ,  
For example, t o  ob ta in  the  e f f e c t  of ma te r i a l ,  the  mean depths 
of pene t r a t ion  a r e  averaged over a l l  v e l o c i t i e s  and degrees of cav i t a -  
t i o n  f o r  mercury o r  water .  The data f o r  the  two f l u i d s  a r e  kept d i s -  
t i n c t ,  and only the  “cold-wet” mercury po in t s  are considered f o r  the  
0 
mercury con t r ibu t ion  i n  the  present comparisons. 
The d e t a i l e d  numerical ca lcu la t ions  a r e  f i l e d  wi th  O . R . A .  Pro j -  6 
ect  03424 ca l cu la t ions  f i l e s  under Damage Program, 1964, F .  G .  H a m m i t t  
ca lc .  of 6/64 and 7/64. 
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To obta in  the  e f f e c t  of ve loc i ty ,  the  averages should be taken 
over a l l  ma te r i a l s  and c a v i t a t i o n  condi t ions f o r  which a set of compara- 
t i v e  v e l o c i t y  da t a  e x i s t s .  A t  present ,  comparative da t a  e x i s t s  f o r  only 
a r e l a t i v e l y  l imi ted  number of mater ia l  and degree of c a v i t a t i o n  combi- 
na t ions  both f o r  water and mercury. 
The procedure f o r  degree of c a v i t a t i o n  comparisons i s  similar, 
and again only a r a t h e r  l imited number of po in ts  e x i s t  a t  present  f o r  
e i t h e r  f l u i d .  
0 4.2 Mater ia l  E f fec t s  
4 .2 .1  General Expectations 
The a b i l i t y  t o  pred ic t  with reasonable p rec i s ion  the  comparative 
r e s i s t a n c e  of d i f f e r e n t  ma te r i a l s  t o  damage from an a r b i t r a r y  c a v i t a t i o n  
f low-f ie ld  remains a major unattained ob jec t ive .  The d i f f i c u l t i e s  
involved i n  overcoming t h i s  obs tac le  a r e  l a rge ly  a r e s u l t  of t he  f a c t  
t h a t  t h e  damage i s  caused i n  most cases by a v a r i e t y  of mechanisms whose 
r e l a t i v e  importance depends on the  p a r t i c u l a r  flow condi t ion ,  f l u i d ,  
m a t e r i a l ,  e t c .  I n  most ca ses ,  a t  l ea s t  the  following mechanisms a r e  
involved : 
i) Fat igue from repeated blows of r e l a t i v e l y  small magnitude, 
i i )  Single-blow f a i l u r e  ( individual  c r a t e r s ) ,  
i i i )  Corrosion o r  o the r  chemical e f f e c t s .  
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The m a t e r i a l  p rope r t i e s  assoc ia ted  with r e s i s t ance  t o  ( i i i )  above a r e ,  
of course ,  i n  no way r e l a t e d  t o  <i) and ( i i ) ,  r e s i s t ance  t o  which a r e  
normally assoc ia ted  with var ious mechanical p rope r t i e s  of ma te r i a l s .  
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Three ca tegor ies  of mechanical p rope r t i e s  of ma te r i a l s  seem 
assoc ia ted  wi th  r e s i s t ance  t o  mechanically-caused c a v i t a t i o n  damage: 
i )  S t rength  o r  hardness proper t ies  as u l t imate  and y i e ld  s t r eng ths ,  
endurance l i m i t ,  hardness,  e t c .  The r e s i s t ance  t o  f a t igue  f a i l -  
u re ,  (i) above, c e r t a i n l y  must involve p rope r t i e s  of t h i s  type; 
P rope r t i e s  associated with f a i l u r e  energy as s t ra in  energy t o  
f a i l u r e ,  impact r e s i s t ance ,  the combination of s t r eng th  and 
d u c t i l i t y ,  e t c .  These c e r t a i n l y  seem in t imate ly  involved wi th  
ii) 
f a i l u r e s  of t h e  type ( i i )  above. 
i i i )  I n  add i t ion ,  time-response and o the r  miscellaneous e f f e c t s  may 
be s i g n i f i c a n t l y  involved i n  some cases. For example, t he  v a r i -  
ous gross  mechanical proper t ies  l i s t e d  above depend s i g n i f i -  
can t ly  upon rate-of- loading,  i f  the r a t e  i s  high.  Also ,  the  
dura t ion  of t he  blow from a co l laps ing  bubble, del ivered e i t h e r  
a s  a shock wave o r  j e t ,  i s  very sho r t  and a l s o  short-range i n  
space so t h a t  highly t r ans i en t  e f f e c t s  become important,  as wel l  
a s  the  poss ib le  a b i l i t y  of the material t o  d e f l e c t  "out-of- 
range" of the load during that  b r i e f  i n s t a n t  i t  i s  appl ied with-  
out incur r ing  permanent e f f e c t s .  
While the  e f f e c t s  discussed under ( i i i )  above a r e  perhaps of con- 
s ide rab le  importance i n  many ac tua l  ca ses ,  they a r e  comparatively very 
d i f f i c u l t  t o  descr ibe  and measure with the present s t a t e  of knowledge i n  
the  ma te r i a l s  f i e l d .  The proper t ies  discussed under ( i )  and ( i i )  above 
a r e  a t  l e a s t  e a s i e r  t o  measure and a r e  perhaps of the  g rea t e s t  impor- 
tance .  It seems l i k e l y  t h a t  some combination of prope r t i e s ,  represent -  
ing  both of these  groups, i . e . ,  ( i )  and ( i i ) ,  would give the  des i red  
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f i g u r e  of meri t  regarding r e s i s t ance  t o  mechanical c a v i t a t i o n  damage. 
However, the  r e l a t i v e  weight t o  be given the two groups may wel l  depend 
on the  p a r t i c u l a r  type 05 t e s t ,  f l u i d ,  and ma te r i a l  involved, so  t h a t  
more than one empir ical  constan: ma2 be required. It i s  hoped t h a t  some 
such " f igure  of merit" m y  r e s u l t  f r o m  the  present  i nves t iga t ion  when 
the  t e s t  s e r i e s  i s  completed. The attempt t o  form such a combined prop- 
e r t y  grouping has not  ye t  been made on the  bas i s  of t he  prel iminary da t a  
a v a i l a b l e .  However, t h i s  da t a  i s  s u f f i c i e n t  t o  show t h a t  no s i n g l e  
mechanical property w i l l  s u f f i c e  t o  provide a reasonable co r re l a t ion .  
4 . 2 . 2  Copper and Nickel Series 
Pure copper, copper-zinc (brass ) ,  copper-nickel ,  and pure 
n i cke l  were se l ec t ed  a s  ma te r i a l s  , r e l a t i v e l y  won-corrodible i n  water ,  
each of which could be hea t - t r ea t ed  t o  give a broad range of mechanical 
p rope r t i e s  with considerable  overlap between the  ma te r i a l s .  
t i o n ,  t he  microstructure  of t he  mater ia l s  i s  c l ean  and simple,  proper- 
t ies  conducive t o  easy metallographic examination. Of these  four  
ma te r i a l s ,  t e s t s  have been completed only on pure copper and b r a s s ,  
each i n  th ree  h e a t - t r e a t  condi t ions:  
I n  addi- 
i )  As received sheet  material (Figure loa) - - f a i r l y  extensive cold- 
work with the  gra ins  elongated i n  a d i r e c t i o n  p a r a l l e l  t o  the  
polished face of the specimens (Figures 2 ,  3 , and 4) , i .e .  , 
p a r a l l e l  t o  t he  flow; 
i i )  Low h e a t - t r e a t  (Figure lob ) - - r e l a t ive ly  s m a l l  g r a ins  i n  an i so -  
t r o p i c  s t r u c t u r e  'p 
i i i )  High h e a t - t r e a t  (Figure l0c ) - - r e l a t ive ly  la rge  g ra ins  i n  an i so -  
t r o p i c  s t r u c t u r e .  
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Figure 10. Photomicrographs of Grain S t r u c t u r e  of OHFC 
Copper a t  lOOX ( a )  A s  Received; ( b )  Recryst- 
a l l i z e d  a t  900*F. 
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Figure 10. Photomicrographs of Grain Structure ofoOHFC 
Copper at lOOX, Recrystallized at 1500 F, (c), 
and Brass, lOGX, As Received, (d). 
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Figure 10. Photomhcrographs of Brass,  ( e )  Recrys ta l l ized  
a t  830 F ,  l O O X ,  and ( f )  Recrys ta l l ized  a t  
1400 F ,  1OOX.  
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The mechanical p rope r t i e s  of these  materials (measured a f t e r  
h e a t - t r e a t )  as p a r t  of the  present  i nves t iga t ion  are l i s t ed  f u l l y  i n  
Table 1. It i s  noted t h a t  f o r  these ma te r i a l s  the  "as received" condi- 
t i o n  i s  charac te r ized  by very  high t e n s i l e  s t r eng th  and hence low duc- 
t i l i t y  and s t r a i n  energy t o  f a i l u r e .  
the  h ighes t  s t r a i n  energy, s l i g h t l y  more than  the minimum t e n s i l e  
s t r e n g t h ,  and hence maximum d u c t i l i t y ,  whereas the  high h e a t - t r e a t  con- 
d i t i o n  i s  charac te r ized  by minimum t e n s i l e  s t r eng th  and moderate s t r a i n  
energy. It i s  f u r t h e r  noted t h a t  there i s  an o v e r a l l  f a c t o r  of  about 4 
i n  s t r a i n  energy f o r  a given mater ia l  from maximum t o  minimum, and a co r -  
The low h e a t - t r e a t  condi t ion  shows 
e 
responding f a c t o r  of about 2 i n  tens i le  s t r eng th .  
Examination of  Table 4 shows t h a t  t he  mean depths of pene t ra t ion  
a t  50 hours (or  100 hours f o r  the  cases where i t  is  ava i l ab le )  f o r  a 
given v e l o c i t y  and degree of c a v i t a t i o n  d i f f e r  only s l i g h t l y  between t h e  
materials o r  the h e a t - t r e a t  condi t ions,  i . e . ,  over a t o t a l  f ac to r -  of 
more than 9 i n  s t r a i n  energy and 3 i n  t e n s i l e  s t r eng th .  This may be 
explained p a r t i a l l y  by the f a c t  t ha t  as the  t e n s i l e  s t r eng th  f o r  t hese  
materials increases  the  s t r a i n  energy decreases ,  i . e . ,  merit i n  one of  
these  p rope r t i e s  can apparent ly  counter weakness i n  another ,  which seems 
i n t u i t i v e l y  reasonable.  Since the  mean depths of pene t r a t ion  i n  these  
cases a r e  about the  same f o r  both mater ia l s  and a l l  hea t  t r e a t s ,  whether 
t he  comparison is  made a t  50 or 100 hours ,  i t  i s  c lear  t h a t  i t  can make 
no d i f f e rence  whether r a t e s  o r  t o t a l  va lues  are compared, s ince  a l l  the  
@ 
damage vs .  dura t ion  curves a r e  e s s e n t i a l l y  p a r a l l e l ,  and i n  f a c t  almost 
i d e n t i c a l  w i th in  the  prec is ion  of the da t a .  The averaged normalized * 
*As previously explained,  no eventual  constant  r a t e  condi t ion 
has been observed i n  any of the  ven tu r i  t e s t s  so  t h a t  t h i s  condi t ion  
also cannot be used as a reference.  
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( a s  previously explained) mean depths of pene t ra t ion  f o r  copper and 
brass  a t  50 and 100 hours f o r  "Standard Cavi ta t ion" and 200 f t . / s e c .  
a r e  p l o t t e d  i n  Figure 11, against  s t r a i n  energy t o  f a i l u r e .  The co r re s -  
ponding curve f o r  th ree  r e f r a c t o r y  a l loys  and s t a i n l e s s  s t e e l  covering 
an approximately similar range of  s t r a i n  energy is a l s o  included, and 
is noted t o  be qu i t e  d i s t i n c t  from the curves for the  coppers and the  
b ra s ses ,  
t o  s t r a i n  energy than f o r  the  coppers and brasses ,  presumably because 
(Table 1) t e n s i l e  s t r eng th  and s t r a i n  energy increase  toge ther ,  so t h a t  
the  previously discussed counterbalancing effect  between these  proper- 
t i e s  does not e x i s t .  Also included f o r  comparison a re  s ing le  po in t s  
f o r  carbon s t e e l  (presumably,not d i r e c t l y  comparable wi th  the o the r s  
because of i t s  r e l a t i v e l y  high c o r r o d i b i l i t y ) ,  aluminum (6061-T6), and 
P lex ig l a s .  It i s  f e l t  t h a t  the apparent r e l a t i v e  i m u n i t y  of t h i s  
ma te r i a l  from c a v i t a t i o n  damage i n  water i s  a t  l e a s t  p a r t i a l l y  the  
r e s u l t  of a very low e l a s t i c  modulus combined with r e l a t i v e l y  high 
s t r e n g t h  p rope r t i e s ,  so  t h a t  i t  may d i s t o r t ,  without incur r ing  permanent 
deformation, out of the  e f f e c t i v e  range of t h e  bubble co l lapse  forces .  
Apparently damage for these ma te r i a l s  i s  much more s e n s i t i v e  
@ 
Also included i n  Figure 11 i s  the  corresponding da ta  f o r  mer- 
cury.  
these  a r e  connected by a s ing le  curve, which i s  d i s t i n c t  from the  o the r  
curves .  However, i t  i s  noted t h a t  i t s  region of maximum s e n s i t i v i t y  t o  
e i the r  s t r a i n  o r  t e n s i l e  s t r eng th  (Figure 12)  i s  f o r  lower values  of 
However , only the  s t e e l s  and r e f r a c t o r i e s  a re  available: and 
these  p rope r t i e s  i n  the  water t e s t s  than i n  the  mercury tests. A d i f -  
f e r e n t i a t i o n  might be expected since the  s t r e s s e s  c rea ted  by c a v i t a t i o n  
i n  water  a r e  l e s s  than f o r  mercury, but t he  a c t u a l  shape of the  curves 
*Damage rate similar to water on coppers and brasses. 
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could not be foreseen.  For e i t h e r  f l u i d  the curve appears t o  be "sa tur -  
ated" f o r  the  higher values  o f  s t ra in  energy o r  t ens i le  s t r eng th .  
ure  12  i s  a corresponding p l o t  against  t e n s i l e  s t r eng th .  
Fig-  
It i s  apparent from Figures 11 and 12  t h a t :  
I n  general ,  no s ing le  mechanical preper ty  i s  adequate t o  co r re -  
l a t e  c a v i t a t i o n  damage d a t a ,  
i )  
i i )  A t  l e a s t  a s t r eng th  property & an energy property must be 
* considered, 
i i i )  I n  some cases ,  a combined property as suggested under ( i i )  above 
would not  be adequate. For example, note  the  d i f f e rence  i n  
behavior of P lex ig las  and the r e f r a c t o r i e s  between water and 
mercury, and a l s o  the  f a c t  t ha t  P lex ig las  is  roughly a s  r e s i s t -  
an t  t o  c a v i t a t i o n  damage as  s t a i n l e s s  s t e e l  i n  water ,  although # 
i t s  s t r eng th  & f a i l u r e  energy a re  much l e s s .  . 
4 . 3  Veloci ty  Ef fec t s  
4 . 3 . 1  General Ant ic ipa t ion  
Many pas t  i nves t iga to r s ,  i n  most cases  using devices such a s  a 
9 
r o t a t i n g  d i s c  type f a c i l i t y , 8  j e t  o r  d rople t  impacting f a c i l i t i e s ,  
i n  t he  case of Krnapp an ogive i n  a water tunnel  have found t h a t  damage 
increases  very  r ap id ly  wi th  ve loc i ty .  I n  some cases  i t  has been reported 
t h a t  t he re  was a threshold ve loc i ty  below which the re  w a s  no damage. It 




ment above the  threshold v e l o c i t y  r a i sed  t o  a power ranging between 5 
* A combined parameter s o  arranged t h a t  it increased with e i t h e r  
energy o r  s t r eng th  could be promising, and experimentation with var ious 
such parameters i s  planned. 
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.k and 7 .  However, i t  i s  c l e a r  from a d e t a i l e d  examination of the  flow i n  
any of these  cases  t h a t  there  i s  no reason t o  expect such a ' ' law" t o  be 
g e n e r a l ,  but: r a t h e r  t h a t  the  operative r e l a t i o n  be a funct ion of the  
type of  flow, and perhaps a l s o  of the ma te r i a l s  t e s t e d  ( inf luenc ing  the  
r e l a t i v e  importance of d i f f e r e n t  f a i l u r e  mechanisms) . 
I n  the  present  case,  the damage has been much l e s s  dependent 
upon the  v e l o c i t y  than i s  usua l ly  reported.  
e r a t i o n  of the  flow i n  the cav i t a t ing  v e n t u r i  i n  t he  v i c i n i t y  of the  
t e s t  specimens ind ica t e s  severa l  possible mechanisms whereby v e l o c i t y  
might be expected t o  inf luence damage: 
However, a d e t a i l e d  consid- 
i )  E f fec t  upon pressure i n  the co l lapse  reg ion ,  thus a f f e c t i n g  
dr iv ing  force f o r  co l l apse .  
ii) "Scale e f f e c t s "  a l t e r i n g  the d e t a i l e d  flow s t r u c t u r e  i n  pres-  
e n t l y  unpredictable  ways.  For example, t he  c a v i t a t i o n  "cloud" 
i n  the water tunnel of t he  present  i nves t iga t ion  appears 
"thinner" (o r  more t ransparent)  a t  high v e l o c i t y  than a t  low. 
The explanat ion i s  not present ly  known, but it i s  c l e a r  t h a t  
depar tures  from the  c l a s s i c a l  s ca l ing  l a w s  involving var ious  
" r e a l  f l u i d "  p rope r t i e s ,  can a l s o  a f f e c t  the  damage. 
i i i )  Increased v e l o c i t y  means added conventional e ros ion .  However, 
zero cavi ta t ion"  t e s t s  indicate  t h a t  the  cont r ibu t ion  of such 11 
eros ion ,  a t  l e a s t  i n  the  absence of c a v i t a t i o n ,  i s  r e l a t i v e l y  
neg l ig ib l e  i n  the  present  t e s t s .  
* Depending upon the  choice of a threshold ve loc i ty ,  which i s  
q u i t e  a r b i t r a r y  i n  many cases ,  The higher  is the  se l ec t ed  threshold 
va lue ,  the  higher the  apparent exponent. 
I n  the present  case, it i s  believed t h a t  the  major e f f e c t  of 
v e l o c i t y  upon damage i s  the  possible  increase  i n  co l laps ing  pressures  
wi th  an increase i n  v e l o c i t y .  It i s  apparent t h a t  t h i s  e f f e c t  i s  l e s s  
pronounced f o r  the  well-developed cav i t a t ion  condi t ions ,  where the  test  
specimens a r e  under pressures  near  vapor pressure  f o r  a l l  v e l o c i t i e s ,  
than f o r  the  less-developed conditions where a s u b s t a n t i a l  por t ion  of 
t h e  test  specimens a r e  downstream of the co l l apse  reg ion  f o r  the 
"cloud," and hence under subs t an t i a l ly  higher  pressure  because of the  
a c t i o n  of the  d i f f u s e r .  
t o  t h i s  type of f a c i l i t y  and would not be the same f o r  o the r  flow 
geometries.  
@ It is noted t h a t  t hese  r e l a t i o n s  a r e  pecu l i a r  
Actual s t a t i c  pressure p r o f i l e s ,  approximately appl icable  f o r  
any v e l o c i t y  s ince  they a r e  normalized by d iv id ing  by the k i n e t i c  pres -  
su re ,  from ven tu r i s  wi th  both water and mercury a r e  shown i n  Figures  
13 through 22,  f o r  var ious degrees of c a v i t a t i o n  and v e l o c i t i e s  i n  both 
f l u i d s  t o  i l l u s t r a t e  t he  above statements.  
12 
A l l  pressure p r o f i l e s  i n  t h i s  r epor t  d i f f e r  from those of pre-  
vious i n  t h a t  t e s t  specimens were present  and data from 
t h r e e  pressure taps  i n  the  polished sur face  of one of the t e s t  specimens 
i s  included. The device used t o  measure these  pressures  c o n s i s t s  of a 
specimen and holder  combination machined out of two p ieces  of P lex ig l a s  
and glued together  t o  form the device shown i n  Figure 23 .  Taps i d e n t i -  
c a l  t o  the w a l l  t a p s  i n  the ventur i  were d r i l l e d  i n t o  the  face of the  
specimens i n  order  t o  measure the  pressures  a t  t h ree  loca t ions  on the  
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Fig.  23.  Drawing of Plexiglas Holder-Specimen Combination for 
Measuring Pressures on the Specimen Face. 
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From the  pressure p r o f i l e s  (Figures 13-22) it can be seen t h a t  
t he  pressures  on the  specimen surface a r e  s l i g h t l y  lower than the  w a l l  
p ressures  measured a t  the  same a x i a l  loca t ion .  For  the  more developed 
c a v i t a t i o n  condi t ions the  pressure on the  w a l l  ad jacent  t o  the  nose of 
the  specimen i s  apparent ly  increased by the flow p a t t e r n  around the  
specimen, presumably causing an increased k i n e t i c  component i n  the  t ap  
reading.  It can a l s o  be seen q u i t e  c l e a r l y  t h a t  the  pressure  grad ien t  
on the  surface of the  specimens i s  very s u b s t a n t i a l  f o r  the l e s s  devel-  
oped c a v i t a t i o n  condi t ions  and less so f o r  the  more f u l l y  developed con- 
d i t i o n s ,  where the  e n t i r e  surface of the  specimen i s  under pressure not 
too  g r e a t l y  i n  excess of vapor pressure.  
0 
The normalized p r o f i l e s  fo r  d i f f e r e n t  v e l o c i t i e s  a re  almost 
i d e n t i c a l  (Figures 13, 14, 1 7 ,  18 and 19) .  Hence, t he  a c t u a l  pressures  
on the  sur face  of the  t e s t  specimens a r e  r e l a t i v e l y  higher  f o r  the  
higher  v e l o c i t y  cases ,  and t h i s  d i f fe rence  becomes s u b s t a n t i a l  i n  tenus 
of a c t u a l  pressure f o r  the less developed c a v i t a t i o n  condi t ions.  Actual 
pressure  values  a r e  given i n  t h e  next s ec t ion  under v e l o c i t y  e f f e c t s ,  
which i l l u s t r a t e  t h i s  very c l e a r l y .  
4 . 3 . 2  Experimental Resul ts  
a .  Water Tes ts  
The e f f e c t  of ve loc i ty  upon normalized* mean depth of penetra- 
t i o n  at 50 and 100 hours dura t ion  (where comparisons a r e  ava i l ab le  from 0 
- 
*Normalized t o  the  maximum mean depth of pene t ra t ion  da ta  poin t  
f o r  t h e  p a r t i c u l a r  s e t  of comparative da ta .  Hence, damage magnitude 
comparisons between d i f f e r e n t  mater ia l s  a r e  not poss ib le  from these 
curves.  
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t he  present  data)  a r e  shown f o r  water i n  Figures  24 and 2 5 .  
shows the  copper and brass  da ta  f o r  "Standard Cavi ta t ion."  It is  noted 
t h a t  v e l o c i t y  has very  l i t t l e  e f f e c t  between 6 4  and 97 f t . / s e c . ,  but 
f a i r l y  s u b s t a n t i a l  e f f e c t  between 97 and 200 f t . / s e c . ,  f o r  which l a t t e r  
range, the  average damage v e l o c i t y  exponent is about 1.5. Generally 
speaking, t he  o v e r a l l  e f f e c t  is somewhat g r e a t e r  f o r  the  brasses  than 
the  coppers.  For the  h ighes t  ve loc i ty  (200 f t . / s e c . ) ,  the  pressure gra- 
d i en t  on the surface of the  specimens i s  g rea t e r  than f o r  the  o the r s ,  so  
t h a t  the  downstream end of the  specimen i s  exposed t o  a higher  pressure 
above vapor pressure by a f a c t o r  of 2 t o  3 than f o r  t h e  two lower vel- 
o c i t i e s ,  f o r  which two the  pressure above vapor pressure  i s  almost the  
same. Thus, t he  bubbles co l laps ing  on the  sur face  of the  specimens a r e  
exposed t o  a g r e a t e r  dr iv ing  force  fo r  co l l apse ,  thus causing g r e a t e r  
damage i n  the  200 f t . / s e c .  runs.  However, the  e f f e c t  on the  pressures  
of varying the  v e l o c i t y  over t h i s  range i s  much l e s s  than might be 
expected, and hence the  e f f e c t  of ve loc i ty  on damage i s  a l s o  f a i r l y  
small. 
It is  noted t h a t  the  e f f e c t  of ve loc i ty  on pressure  f o r  the  mercury da ta  
i s  a l s o  q u i t e  small, as w a s  the  damage v a r i a t i o n  wi th  v e l o c i t y .  An 
except ion i s  the downstream t a p  pos i t ion  f o r  the "wet" mercury high- 
v e l o c i t y  run.  The pronounced d i f fe rence  i n  pressure p r o f i l e s  between 
"dry" and "wet" mercury i s  not explainable a t  present .  
more rap id  pressure recovery i n  the "wet" mercury may be r e l a t e d  t o  the  




Table 7 shows t y p i c a l  sets of da ta  f o r  both water and mercury. 
However, the 0 
*Assuming the  r e l a t i o n :  Damage.= Constant X Velocityn, where n 
i s  the  damage v e l o c i t y  exponent. 
h 
VELOCITY, FT/SEC 
Fig. 24. (MDP)/(MDPm versus Velocity for Standard 
Cavitation %'Water for Copper and Brasses. 
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Fig. 25 .  (MDP) /(MDPm,) versus Velocity for Standard Cavitation 
i n  Water for  Stainless Stee l  and Carbon Stee l .  
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TABLE 7 
ACTUAL PRESSURE ABOVE VAPOR PRESSURE ON TEST SPECIMEN SURFACE 
FOR STANDARD CAVITATION IN MERCURY AND WATER15 
Velocity No. of Spec. Pressure ( p s i )  
Fluid Ft,/Sec.  Specs. Tap No. Run No. 1 Run No. 2 Run No. 3 
Water 6 4  3 1 3.9 4.4 3.0 
54°F. 2 4.2 4.5 3.4 
3 4.6 5.0 3.9 
Water 97 3 1 2.6 2.6 2.4 
54°F. 2 3.4 2.9 2.9 
3 4.9 4.3 3.3 
@ Water 
75°F. 








3 11.7 7.1 6.2 
"Dry" 23 3 1 3.5 4.7 3.6 
Mercury 2 9.2 11.0 16.0 
75°F. 3 15.1 16 .O 1,. 2 
"Dry" 34 3 1 5.3 7 .O 6.5 
Mercury 2 11.5 17.5 13.8 
88°F. 3 19.1 29.3 25.5 
"Dry" 46 3 1 12.1 9.1 8.7 
Mercury 2 9.4 9.8 8.2 
120°F. 3 14.7 16.3 16.6 
'Wet" 23 3 1 9.7 11.1 
Mer cur y 2 15.5 15.8 
75°F. 3 21.6 22.1 
"Wet" 34 3 1 3.3 3.1 
Mercury 2 11.4 12.2 
88'F. 3 31.1 31.3 
'Wet" 46 3 1 8.3 3.5 
Mercury 2 20.6 16 .O 










No da ta  i s  ye t  ava i l ab le  f o r  these ma te r i a l s  a t  o the r  c a v i t a t i o n  
condi t ions .  However, i t  i s  expected t h a t  the  increase  of damage wi th  
v e l o c i t y  should be g rea t e r  f o r  "Cavitation t o  Nose" o r  "Visible I n i t i a -  
t i on , "  s ince  the  pressure across  the specimen would then be higher and 
more dependent upon ve loc i ty .  By the same token, i t  i s  presumed t h a t  
the  v e l o c i t y  e f f e c t  would be much less  f o r  a more f u l l y  developed cavi -  
t a t i o n  condi t ion a s  "Cavitation t o  Back." The pressure  p r o f i l e s  i n  
Figures 20, 21 ,  and 22 f o r  water and Figures 15 and 16 f o r  mercury 
demonstrate the  above supposi t ions very c l e a r l y .  It can be seen t h a t  
t h e  pressure gradient  on the  surface of the t e s t  specimens is  very sev- 
e r e  f o r  "Visible I n i t i a t i o n "  and "Cavitation t o  Nose" and very low f o r  
"Standard Cavi ta t ion" and "Cavitation t o  Back." 
15, 16, 20, 2 1  and 2 2 ,  i t  is  a l s o  noted t h a t  the  absolute  magnitude of 
the pressure grad ien t  on the  surface of the t e s t  specimens increases  
wi th  v e l o c i t y ,  f o r  any c a v i t a t i o n  condi t ion,  s ince ,  f o r  a given cav i t a -  
t i o n  condi t ion ,  the  normalized gradien ts  a r e  not p a r t i c u l a r l y  ve loc i ty-  
s e n s i t i v e .  
0 
Comparing f i v e  Figures  
Figure 25 shows f o r  s t a i n l e s s  s t e e l  and carbon s teel  comparisons 
corresponding t o  Figure 24 f o r  the  brasses ,  e t c .  The carbon s t e e l  curve 
i s  q u i t e  s imi l a r  t o  t h a t  f o r  the  brasses e spec ia l ly ,  except t h a t  the 
e f f e c t  i n  the  lower v e l o c i t y  range i s  g r e a t e r .  The o v e r a l l  v e l o c i t y  
exponent f o r  t h i s  curve i s  about 3 .  The c u n e  f o r  s t a i n l e s s  s t e e l  i s  
g r e a t l y  d i f f e r e n t  i n  t h a t  the  maximum damage occurs a t  97 f t . / s e c . ,  and 
the  damage decreases considerably for  200 f t . / s e c .  It i s  believed t h a t  
the  explanat ion f o r  such unexpected behavior,  which, a s  w i l l  be noted, 
a l s o  occurs f o r  mercury i n  some cases,  involves the  i n t e r p l a y  between 
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the  increased co l lapse  pressure due to  increased v e l o c i t y  and d e t a i l e d  
f low-structure  changes lumped under the term "scale  e f f e c t s . "  Presum- 
ab ly  ma te r i a l  p rope r t i e s  a re  a l s o  involved, s ince  they a f f e c t  t h e  r e l a -  
t i v e  importance of d i f f e r e n t  damage mechanisms. 
b .  Mercurv Tes ts  
The v e l o c i t y  e f f e c t s  with mercury f o r  "Standard Cavi ta t ion" a r e  
shown i n  Figure 26 f o r  s t a i n l e s s  s t e e l  and Cb - 1 Z r  a l l o y ,  both a f t e r  50 
and 100 hours i n  those cases  f o r  which da ta  i s  ava i l ab le .  I n  addi t ion ,  
a curve f o r  s t a i n l e s s  s t e e l  f o r  "Cavitation to  Back" i s  included. a 
The e f f e c t  of a v e l o c i t y  change over the  range from 24 t o  64 
f t . / s e c .  a t  "Standard Cavi ta t ion" for  s t a i n l e s s  s t e e l  i s  not s i g n i f i -  
can t .  A s  noted, the  50 hour curve shows a minimum a t  34 f t . / s e c .  and 
t h e  100 hour curve a maximum at  the  same po in t .  However, the  d f f f e r -  
ewes are not la rge  enough t o  be considered s i g n i f i c a n t  i n  view of the  
l imi ted  da ta .  Cb - 1 Z r  shows about a 2 : l  increase  of damage f o r  an 
increase  of v e l o c i t y  from 34 t o  48 f t . / s e c . ,  corresponding t o  a v e l o c i t y  
exponent of about 2 over t h i s  range. Again, the da ta  i s  considered too 
l imi ted  t o  be s i g n i f i c a n t .  For "Cavitation t o  Back" a decrease i n  dam- 
age by a f a c t o r  of about 4 i s  shown f o r  a v e l o c i t y  increase  from 34 t o  
64 f t . / s e c .  
On the  whole, i t  i s  f e l t  that  no cons is ten t  t rend of damage with 
v e l o c i t y  i s  indicated by t h i s  r a the r  l imited da ta  f o r  the well-developed 0 
c a v i t a t i o n  condi t ions.  Since s t a t i c  pressure i n  the region of the t e s t  
specimens (Figures 13 and 14) i s  n o t  p a r t i c u l a r l y  velocity-dependent,  
the  general  r e s u l t  i s  a s  expected. 
80 
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The v e l o c i t y  e f f e c t  i n  mercury f o r  the  less-developed c a v i t a t i o n  
condi t ions  of "Cavitation t o  Nose" and "Visible I n i t i a t i o n "  a r e  shown i n  
Figure 27 f o r  those cases  where the  da ta  e x i s t s .  Figure 13 shows the  
c orresponding pressure p r o f i l e  f o r  "Visible I n i t i a t i o n "  i n  the  lower 
v e l o c i t y  range. Since the  ao rml i zed  pressure above vapor pressure i s  
we l l  above zero over the  t e s t  specimen, the  a c t u a l  pressure v a r i e s  sub- 
s t a n t i a l l y  with ve loc i ty .  Thus, the dr iv ing  force  causing bubble co l -  
lapse i s  highly velocity-dependent for  these c a v i t a t i o n  condi t ions ,  so 
t h a t  i t  would be expected t h a t  damage would increase  s t rong ly  with v e l -  
o c i t y .  Examination of the  curve for "Cavitation t o  Nose" ind ica t e s  t h a t  
t h i s  i s  the  case wi th  a v e l o c i t y  exponent a s  averaged over the  d i f f e r e n t  
ma te r i a l s  of about 2 . 2 .  The s ingle-poin t  da ta  f o r  "Visible I n i t i a t i o n , "  
while  s t i l l  showing an increase  of damage wi th  v e l o c i t y ,  i s  apparent ly  
less velocity-dependent . Since the o v e r a l l  damage f o r  t h i s  condi t ion 
i s  much l e s s ,  and hence the  experimental p rec is ion  much poorer,  t h i s  
point  should not be considered a s  p a r t i c u l a r l y  s i g n i f i c a n t  compared t o  
the  "Nose Cavi ta t ion" poin ts .  
The present  data,  both f o r  mercury and water ,  gives  no good 
ind ica t ion  (with the  poss ib le  exception of Figure 27) of the  exis tence 
of a threshold ve loc i ty .  It seems more l i k e l y  t h a t  f o r  t h i s  type of 
f a c i l i t y  there  w i l l  be some damage even f o r  q u i t e  s m a l l  v e l o c i t i e s  a s  
long as c a v i t a t i o n  i t s e l f  occurs .  0 
4 . 4  Degree of Cavi ta t ion  Ef fec t s  
4 .4 .1  General Anticipat ions 
A s  previously discussed i n  g rea t e r  d e t a i l Y 3  varying the  degree 
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83 
( a t  f ixed  ve loc i ty )  has two primary e f f e c t s  r e l a t i v e  t o  damage: 
i )  The average normalized s t a t i c  pressure  adjacent  t o  the  specimens, 
causing bubble co l lapse  decreases;  
i i )  The number of bubbles i n  the v i c i n i t y  of the  t e s t  specimens 
increases .  However, as t he  number of bubbles increases ,  the  
energy ava i l ab le  pe r  bubble t o  cause damage decreases .  This i s  
t r u e  even though many of the bubbles may be the  r e s u l t  of l o c a l  
c a v i t a t i o n  caused by the  specimens themselves. Thus, it would 
be expected t h a t  damage would increase  from very l i t t l e  a s  cavi -  
t a t i o n  condi t ion  was increased from i n i t i a t i o n ,  would pass 
through a maximum, and then decrease as the  bubbles became of 
i n s u f f i c i e n t  energy t o  cause damage. Representative a x i a l  pres-  
sure  p r o f i l e s  a r e  presented i n  Figures  15, 16, 20, 2 1  and 22. 
As has been previously discussed,  the  s i t u a t i o n  may be repre-  
1 
sented by a p lo t  a s  shown schematically i n  Figure 28, showing a hypoth- 
es ized  bubble energy spectrum, i . e . ,  n(E) = (number of bubbles of energy 
E) v s .  E .  As shown in the  f igu re ,  as  the  c a v i t a t i o n  degree moves toward 
ful ly-deve loped ( " F i r s t  Mark Cavitation") , the  number of bubbles 
inc reases ,  but the  average energy per bubble decreases .  
4 .4 .2  Experimental Resul ts  
The experimental r e s u l t s  r e l a t i n g  degree of cav i tg t ion  t o  damage 
a r e  summarized i n  Figure 2 9 .  Separate curves are shown f o r  t he  follow- 
ing d i s t i n c t  condi t ions:  
0 
i )  Three-specimen ven tu r i  i n  water (copper and brass  specimens) 
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are g e n e r a l l y  similar,  b u t  a t  h i g h e r  n(E) and E. The 
q u a n t i t y  n(E) = number of bubbles  from those " i n  
v i c i n i t y "  of damage specimen which d e l i v e r  an energy 
quantum E t o  t h e  su r face  of t h e  specimen, and E = 
energy d e l i v e r e d  by a n  i n d i v i d u a l  bubble t o  t h e  
s u r f a c e  of t h e  specimen. 
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i i i )  Two-specimen ven tu r i  i n  mercury--included are po in t s  f o r  two 
ma te r i a l s  ( s t a i n l e s s  s t e e l  and Cb - 1Zr) and two v e l o c i t i e s  (34 
and 64 f t . / s e c . )  
The number of specimens i n  the ven tu r i ,  i . e . ,  whether a two- o r  
three-specimen v e n t u r i  i s  used (designs of which have been previously 
descr ibed) ,  i s  important because of the  change i n  flow p a t t e r n  and pres-  
sure  p r o f i l e  i n  the  v i c i n i t y  of the  Specimens, as discussed below. The 
dura t ions  f o r  which the comparisons a r e  made a r e  gene ra l ly  of the  order  
of 50 t o  100 hours and a r e  appropr ia te ly  labeled on the  curve shee t .  @ 
a .  Overal l  Trend 
The o v e r a l l  t rend  i s  as expected, i . e . ,  f o r  a l l  cases  the  damage 
passes  through a maximum as the  degree of c a v i t a t i o n  is  increased from 
zero,  approaching very low va lues  f o r  e i t h e r  extreme, i . e . ,  i n i t i a t i o n  
o r  ful ly-deve loped ("Fi rs t  Mark Cavitation") . 
b. Two-Specimen vs  . Three-Specimen Venturi  
The comparison between two-specimen and three-specimen ven tu r i s  
wi th  regard t o  damage e f f e c t s  i s  ava i lab le  only f o r  water ,  and must be 
made across  ma te r i a l s ,  i . e . ,  s e t s  of copper and brass  da ta  only a r e  
ava i l ab le  f o r  the  three-specimen un i t ,  and only s t a i n l e s s  s t e e l  da ta  
f o r  the  two-specimen type. It appears t h a t  the  most damaging condi t ion  
f o r  t he  two-specimen v e n t u r i  is  close t o  "Visible I n i t i a t i o n , "  and f o r  
the  three-specimen type i t  i s  close t o  "Standard Cavi ta t ion ."  At pres-  
e n t ,  the  corresponding pressure p r o f i l e s  i n  water a r e  only ava i l ab le  
f o r  "Standard Cavi ta t ion" showing the e f f e c t s  of number of specimens a t  
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The difference between the two-specimen and three-specimen ven- 
turis for mercury at two velocities are shown in Figures 33, 3 4 ,  35 and 
36.  
shows that in general the magnitude of the actual pressures on the 
specimen mrface is greater when the number of test specimens in the 
venturi is increased. Thus, the mean pressure for "Standard Cavitation" 
for the three-specimen venturi is similar to that for a less developed 
cavitation condition as "Cavitation to Nose" or "Visible Initiation" 
for a two-specimen unit, as required by the damage results previously 
discussed (Figure 29). However, the same comparison for the correspond- 
ing profiles in water shows little effect at the two lower velocities, 
but shows that the pressure gradient and pressures on the surface of the 
test specimens are greater for the two-specimen venturi than for the 
three-specimen venturi for 200 ft./sec. 
An examination of the corresponding pressure profiles in mercury 
As mentioned previously, although the same terms are used to 
describe the cavitation conditions for both types of venturis, the cor- 
responding flow patterns are not identical. Detailed visual descrip- 
tions and cross correlations between mercury and water conditions are 
given in the Appendix. 
c. Mercury vs. Water 
The only presently available comparison between mercury and 
water is for the two-specimen venturi with stainless steel. For mer- 
cury, Cb - 1Zr is also available for the two-specimen venturi, while it 
is available only for water in the three-specimen venturi. In mercury, 
it yields results very similar to those of stainless steel, so that 



























































































It i s  noted from Figure 29 tha t  the  maximum damage occurs wi th  a 
less-developed c a v i t a t i o n  condi t ion for  water than f o r  mercury. 
examination of comparable mercury a t  33 f t . / s e c .  and water a t  97 f t . / s e c .  
pressure p r o f i l e s ,  Figures 16 and 2 1  r e spec t ive ly ,  shows t h a t  t h e  pres-  
sure  grad ien t  on the sur face  of the  t e s t  specimens f o r  "Standard Cavi ta-  
t ion" i n  mercury is  very similar t o  t h a t  f o r  "Cavi ta t ion t o  Nose" i n  
water ,  and t h a t  f o r  "Cavitation t o  Back" i n  mercury t o  t h a t  fo r  "Stand- 
a rd  Cavi ta t ion" i n  water .  Hence, the pressure  p r o f i l e s  a r e  cons i s t en t  
with the  damage d a t a ,  i n  t h i s  respect .  This d i f fe rence  i n  behavior 
between mercury and water has been discussed previously when l e s s  com- 
prehensive da ta  w a s  a v a i l a b l e .  New damage da ta  has been cons i s t en t  wi th  
the  o l d ,  and the  explanat ion can now be given. 
An 
1 e 
Since the  c a v i t a t i o n  conditions a r e  set v i s u a l l y ,  i t  was not 
c e r t a i n  t h a t  a given v i s u a l  s e t t i n g  of t h e  apparent end of t h e  cav i t a -  
t i o n  cloud i n  mercury, where only a c t i v i t y  i n  the  boundary layer  can be 
viewed, would produce pressure p r o f i l e s  similar t o  those from the  s e t -  
t i n g  of apparent ly  the  same cloud termination pos i t i on  i n  water,  where 
an averaged view through the  stream i s  obtained. However, s ince  the  
comparable pressure p r o f i l e s  f o r  mercury and water ,  Figures 16 and 2 1  
r e spec t ive ly ,  where the  v i s u a l  s e t t i n g  of the terminat ion of t he  c a v i t a -  
t i o n  cloud i s  a t  the middle of the  specimen (being "Standard Cavi ta t ion" 
f o r  mercury and "Cavitation t o  Nose" f o r  water a s  explained i n  the  
Appendix), show s u b s t a n t i a l l y  the  same pressure p r o f i l e  on the  sur face  
of t he  specimens, i t  appears t h a t  the  v i s u a l  s e t t i n g s  of the termina- 
t i o n  point  i n  mercury do correspond t o  those i n  water .  Other measure- 




the visual  sett ing does indeed correspond with the centerline termina- 
t ion  of the cavitation cloud i n  the venturi, thus further confirming 
the visual sett ings i n  mercury. 
e 
a 
5 . 0  CONCLUSIONS 
Many conclusions a r e  drawn throughout t he  body of the r e p o r t .  
However, those which a r e  of g r e a t e s t  importance a r e  bel ieved t o  be the 
f o 1 lowing : 
i )  Tes t s  with pure copper and 70/30 bras s ,  each under three  hea t -  
t r e a t  condi t ions ,  a f fords  a group of r e l a t i v e l y  non-corrodible 
mater ia l s  i n  water which have a broad range of mechanical prop- 
ert ies.  The extreme va r i a t ion  i n  t e n s i l e  s t r eng th  i s  by a fac-  
t o r  of about 3, and t h a t  i n  s t r a i n  energy t o  f a i l u r e  about 9.  
For t h i s  group of materials i n  genera l ,  as s t r eng th  p rope r t i e s  
increase ,  d u c t i l i t y  and s t r a i n  energy t o  f a i l u r e  decrease.  
Since the  mean depths of penetrat ion induced by c a v i t a t i o n  f o r  
a l l  these  materials does not d i f f e r  s u b s t a n t i a l l y ,  it i s  appar- 
en t  t h a t  high s t r eng th  and low s t r a i n  energy, o r  vice-versa ,  
represent  combinations of proper t ies  giving s u b s t a n t i a l l y  equal  
r e s i s t ance  t o  c a v i t a t i o n  damage. Hence, i t  is  apparent t h a t  no 
s ing le  property can i n  general  s a t i s f a c t o r i l y  c o r r e l a t e  cav i t a -  
t i o n  damage. Rather a grouping of p rope r t i e s ,  involving & 
least a representa t ive  s t rength  property,  & an energy property 
i s  required.  
The above conclusions are fu r the r  re inforced  by the  f a c t s  that: 
a.  S t e e l s  and r e f r ac to ry  metals which were t e s t e d  show increas-  
ing r e s i s t ance  t o  cav i t a t ion  damage a s  e i t h e r  s t r eng th  o r  
97 
98 
s t r a i n  energy i s  increased. However, f o r  the  ma te r i a l s  of 
these types which were t e s t ed ,  these  p rope r t i e s  increase  
toge ther .  
t r a t i o n  f o r  these mater ia ls  versus ,  e .g . ,  s t r a i n  energy, i s  
very s u b s t a n t i a l l y  d i f f e ren t  from t h a t  f o r  t he  coppers an& 
brasses ,  and a l s o  d i f f e r s  depending on whether the  test  
f l u i d  i s  water o r  mercury. 
The bes t  curve t o  represent  mean depth of pene- 
b .  Compared t o  s t e e l s ,  e .g . ,  p l ex ig l a s  i s  very immune from cav- 
i t a t i o n  damage i n  water ( i n  the  present  t e s t s ) ,  but very 
subjec t  t o  damage i n  mercury. Hence, damage c o r r e l a t i n g  
parameters must i n  some way consider coupling parameters .- 
between f l u i d  and material a s  we l l  a s  simply ma te r i a l  par-  
ameters. The same conclusion can be drawn from the  d i f f e r -  
ences i n  behavior of s t e e l s  and r e f r a c t o r i e s  between water  
and mercury mentioned under (a )  above. 
i i )  I n  the  c a v i t a t i n g  v e n t u r i  arrangement used i n  the  present  t e s t s ,  
the  mean depth of penetrat ion r a t e  shows an i n i t i a l  hump before 
s i g n i f i c a n t  damage has been su f fe red ,  and hence, before  the re  
can be s i g n i f i c a n t  flow per turba t ion .  Hence, t h i s  must be a 
r e s u l t  of mater ia l  sur face  p rope r t i e s  and behavior a s  perhaps 
the  e a r l y  removal of  inclusions o r  o ther  "weak spots , "  o r  the  
incurrance of s u b s t a n t i a l  surface cold-work e a r l y  i n  the tes t .  
One o r  s eve ra l  subsequent humps i n  the  r a t e  curves occur a f t e r  
s u b s t a n t i a l  damage e x i s t s  t o  a degree which i s  capable of s i g -  
n i f i c a n t  flow per turba t ion .  The f i r s t  of these "secondary" 
humps i s  apparent ly  comparable t o  the  hump a l ready  observed by 
99 
o the r  i nves t iga to r s  i n  the  r a t e  curve from e i t h e r  magnetostric- 
t i o n  o r  r o t a t i n g  d i s c  apparatuses.  However, a s  opposed t o  the  
observat ions from the  magnetostr ic t ion type f a c i l i t y ,  the  pres -  
en t  r a t e  curves (from the  ventur i  f a c i l i t i e s )  show no ind ica t ion  
of becoming asymptotic t o  a f ixed  va lue .  
Quant i ty  of damage with mercury a s  t e s t  f l u i d  i s  very s e n s i t i v e  
t o  "ef fec t ive"  vapor pressure.  It was found t h a t  mercury con- 
t a in ing  a t r a c e  of water was an order  of 10 times more damaging 
t o  s t a i n l e s s  s t e e l  than was s u b s t a n t i a l l y  dry mercury. It i s  
bel ieved t h a t  the  s ign i f i can t  d i f f e rence  i s  t h a t  of vapor pres- 
su re ,  which can a f f e c t  s u b s t a n t i a l l y  bubble nucleat ion growth, 
and co l lapse .  This conclusion i s  re inforced  by the f a c t  t h a t  a 
damage t e s t  with a u s t e n i t i c  s t a i n l e s s  s t e e l  i n  "dry" mercury a t  
500°F proved about as damaging a s  "wet" mercury a t  room tempera- 
t u r e ,  and hence much more damaging than "dry" mercury a t  room 
temperature.  Since the  mechanical p rope r t i e s  of a u s t e n i t i c  
s t a i n l e s s  s t e e l  a r e  not very g r e a t l y  a f f ec t ed  by a temperature 
of 500"F, i t  i s  f e l t  t h a t  the  s i g n i f i c a n t  change i s  t h a t  of 
vapor pressure.  
same order  as t h a t  of room temperature water (and hence of room 
temperature "wet" mercury), whereas the  vapor pressure of room 
temperature "dry" Eercury i s  s u b s t a n t i a l l y  n i l .  
A pin-type c a v i t a t i o n  specimen held i n  the  c a v i t a t i n g  region of 
the  v e n t u r i  d i f fuso r  normal t o  the  stream has been developed, 
upon which damage i s  incurred orders  of magnitude more r ap id ly  
than upon the  "conventional" p la te - type  specimens used h i t h e r t o .  
Such a specimen design would c o n s t i t u t e  a very acce lera ted  
i i i )  
The vapor pressure  of  500°F mercury i s  of the  
i v )  
100 
c a v i t a t i o n  device,  e spec ia l ly  with "wet" mercury, 
i t  emphasizes the  f a c t  t h a t  combined vor tex  and t r a n s l a t o r y  
flows (as  wi th  the  pin-type specimen) a r e  ve ry  damaging com- 
pared with s u b s t a n t i a l l y  t r ans l a to ry  flow (a s  wi th  the p l a t e -  
type specimen). 
turbomachinery t e s t s ,  o r  by the ro t a t ing -d i sc  type of c a v i t a t i o n  
damage f a c i l i t y .  It poin ts  up the  p o s s i b i l i t y  of modeling a 
given turbomachinery flow i n  a c a v i t a t i n g  v e n t u r i  by s u i t a b l y  
ad jus t ing  the  pressure grad ien t ,  v o r t i c i t y ,  and v e l o c i t y .  
Quantity of damage i s  not near ly  so  dependent upon ve loc i ty  i n  
t he  c a v i t a t i n g  v e n t u r i  as i n  o the r  types of c a v i t a t i o n  t e s t s  
which have been reported.  However, the  dependence i s  g r e a t e s t  
f o r  the  l e s s  fully-developed c a v i t a t i o n  condi t ions ,  s ince ,  fo r  
t hese ,  the dependence of s t a t i c  pressure i n  the  v i c i n i t y  of the  
t e s t  specimens i s  the  g rea t e s t .  
The dependence of damage upon degree of c a v i t a t i o n  i s  such t h a t  
i t  reaches a maximum f o r  an intermediate  c a v i t a t i o n  condi t ion,  
becoming very small f o r  e i t h e r  extreme, i . e . ,  i n i t i a t i o n  o r  
fully-developed. This observation i s  explained on the  bas i s  of 
the  i n t e r p l a y  between the  number of bubbles i n  the  v i c i n i t y  of 
the  t e s t  specimens (which increases  as the  c a v i t a t i o n  becomes 
more f u l l y  developed) and the s t a t i c  pressure ,  which provides 
the  dr iv ing  force  f o r  co l lapse ,  and which decreases a s  the  cavi -  
t a t i o n  becomes more developed. 
I n  add i t ion ,  
This  observation a l s o  i s  c f  course v e r i f i e d  by 
v) 
v i )  
The maximum damage occurs f o r  mercury f o r  the same a c t u a l  
c a v i t a t i o n  condi t ion as  defined by pressure p r o f i l e s  a s  f o r  
10 1 
water. Its re lat ion to  degree of cavitat ion depends a lso  upon 
the number of t e s t  specimens i n  the venturi (since the flow 
pattern i s  so af fected) .  
6.0 APPENDIX 
The degree of c a v i t a t i o n  terminology has somewhat d i f f e r e n t  
s ign i f i cance  f o r  mercury than f o r  water. I n  t h e  two-specimen mercury 
v e n t u r i ,  c a v i t a t i o n  i n i t i a t e s  a t  the t h r o a t  o u t l e t  f o r  a l l  v e l o c i t i e s  
used thus  f a r ,  and the  degree of cav i t a t ion  appl ied t o  the  mercury 
* 
t e s t s  descr ibes  the  ex ten t  of the  cav i t a t ion  cloud s t a r t i n g  a t  t he  
t h r o a t  o u t l e t  and extending downstream t o  the poin t  i nd ica t ed ,  i . e . ,  
"Cavi ta t ion t o  Nose," e t c . ,  are self-explanatory.  However, i n  t he  case 
of the  three-specimen ven tu r i s  used wi th  water,  the  c a v i t a t i o n  cloud 
i n i t i a t e s  on the  nose of the specimens and extends downstream t o  some 
point  a r b i t r a r i l y  labeled i n  terms of the  degree of  c a v i t a t i o n  terminol- 
ogy previously e s t ab l i shed  f o r  t he  two-specimen v e n t u r i s .  The f i r s t  
v i s i b l e  manifestat ion of c a v i t a t i o n  occurs on the  nose of the  t e s t  
specimen, and thus the  term Vis ib le  I n i t i a t i o n  was appl ied i n  t h i s  case.  
Then succeeding degrees of cav i t a t ion  followed the  old progression,  thus 
not  s ign i fy ing  the  terminat ion point on the  specimen, as previously.  
The following a r e  the  d e f i n i t i o n s  of the  degrees of c a v i t a t i o n  as used 
i n  t h i s  inves t iga t ion :  
0 
Mercury (2-Specimen Venturi) 0 - 
Vis ib l e  I n i t i a t i o n  - continuous r i n g  of c a v i t a t i o n  a.t the  
throat  out  l e t ,  about 1/8" long. 
* No three-specimen ven tu r i  has been used i n  the  mercury damage 
t e s t s .  
102 
103 
Cavi t a t ion  t o  Nose - Cavitat ion cloud extends from t h r o a t  
o u t l e t  t o  terminat ion a t  the  nose of 
t he  specimen. 
Standard Cavi ta t ion  - c a v i t a t i o n  cloud extends from th roa t  
o u t l e t  +YO terminat ion a t  t h e  middle of 
the apeciaen. 
Cavi ta t ion  t o  Bzck - c a v i t a t i o n  cloud extends from t h r o a t  
o u t l e t  t o  terminat ion a t  the  rear of  
the  specimen. 
Water (3-Specimen Venturi)  
V i s ib l e  I n i t i a t i o n  - c a v i t a t i o n  cloud extends from nose of 
specimen t o  a point  downstream on spec i -  
men; about 1/8" long. 
Cav i t a t ion  t o  Nose - c a v i t a t i o n  cloud extends from nose of 
specimen t o  terminat ion a t  the middle 
of the specimen. 
Standard Cavi ta t ion  - c a v i t a t i o n  cloud extends from nose 0-f 
specimen t o  terminat ion a t  the r e a r  of 
the specimen. 
From the  pressure  p r o f i l e  data i n  t h i s  r e p o r t  t h e  correspondence 
betaZen water  and mercury from a standpoint of degree o f  c a v i t a t i o n  
should more g raph ica l ly  have been made as follows: 
Mercury C ~ t ~ d i t i i ~ n  corresponds to Water Condition 
C ? m i t a t i o n  t o  Nose -- Vis ib l e  I n i t i a t i o n  
Standard Cavi ta t ion  -- Cavi ta t ion  t o  Nose 
(:",vi",etion t o  Esck - -  Standard Cavi ta t ion  
Th i s  would r e s u l t  in t h e  pressure grad ien ts  on the  sur faces  and 
the  terminat ion po in t s  on t h e  surfaces  being the same f o r  corresponding 
condi t ions  from water t o  mercury. 
103 
Cav i t a t ion  to Nose - 
Standard Cavi ta t ion  - 
Cavi t a t ion  t o  Back - 
Water (3-Specimen Venturi) 
V i s ib l e  I n i t i a t i o n  - 
Cavi t a t ion  t o  Nose - 
Standard Cavi ta t ion  - 
cav i t a t ion  cloud extends from t h r o a t  
o u t l e t  t o  terminat ion a t  the  nose of 
t he  specimen. 
cav i t a t ion  cloud extends from t h r o a t  
o u t l e t  to terminat ion a t  t he  middle of 
t h e  specimen. 
c a v i t a t i o n  cloud extends from t h r o a t  
o u t l e t  t o  terminat ion a t  the  rear of  
t he  specimen. 
c a v i t a t i o n  cloud extends from nose of 
specimen t o  a poin t  downstream on speci- 
men; about 1/8" long. 
c a v i t a t i o n  cloud extends from nose of 
specimen t o  terminat ion a t  the  middle 
of the specimen. 
c a v i t a t i o n  cloud extends from nose of 
specimen t o  terminat ion a t  the  rear of 
the specimen. 
Prom t h e  pressure  p r o f i l e  data i n  t h i s  r epor t  t h e  correspondence 
between water and mercury from a standpoint of degree of  c a v i t a t i o n  
should more g raph ica l ly  have been made as follows: 
Mercury Condition corresponds t o  
G ~ ~ i t a ' c i ~ t ~  t o  Mose -- 
§ t an -1 ab- d C ipt' i t a t  i. on 
Cav i t a t ion  t o  Beck -- 
- -  
Water Condition 
Vi s ib l e  I n i t i a t i o i  
Cavi ta t ion  t o  Nose 
Standard Cavi ta t ion  
This  would r e s u l t  i n  the  pressure grad ien ts  on the  su r faces  and 
the  te rmina t ion  poin ts  on the  surfaces  being the same f o r  corresponding 
condi t ions  from water t o  mercury. 
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